# Assessment of concrete strength by lok and capo tests 

Hamoud Abdullrab Mohammed Bishr
Civil Engineering
June 1990


#### Abstract

It is recognized that strength of concrete in structures is different than strength of control specimens, therefore an increased demand for more precise and more practical methods of in-situ assessment of concrete quality had led to the development of a large variety of techniques to evaluate concrete properties, such as strength, durability and quality control.


Pullout testing of concrete is one of these techniques which divides into two basic categories; the first one has an insert which is cast into the concrete (lok-test), the other has an insert fixed into a hole drilled into the hardened concrete (capo-test).

The purpose of this study is to verify the accuracy and reliability of lok-test and capo-test methods for estimation of in-situ compressive strength of concrete made with commonly used local materials, and to develop the necessary calibration curves between pullout force and standard compressive strength for various types of aggregates, cement contents and water cement ratios.

Based on a regression analysis of the generated data, effects of the previous variables on the behavior of strength have been studied and the calibration curves developed.

The proposed models have been verified for their reliability by comparing predicted strength with the actual strength.

# Assessment of Concrete Strength by Lok and Capo Tests 

by<br>Hamoud Abdulrab Mohammed Bishr<br>A Thesis Presented to the<br>FACULTY OF THE COLLEGE OF GRADUATE STUDIES<br>KING FAHD UNIVERSITY OF PETROLEUM \& MINERALS<br>DHAHRAN, SAUDI ARABIA<br>In Partial Fulfillment of the Requirements for the Degree of<br>\section*{MASTER OF SCIENCE}<br>In<br>\section*{CIVIL ENGINEERING}

June, 1990

## INFORMATION TO USERS

This manuscript has been reproduced from the microfilm master. UMI films the text directly from the original or copy submitted. Thus, some thesis and dissertation copies are in typewriter face, while others may be from any type of computer printer.

The quality of this reproduction is dependent upon the quality of the copy submitted. Broken or indistinct print, colored or poor quality illustrations and photographs, print bleedthrough, substandard margins, and improper alignment can adversely affect reproduction.

In the unlikely event that the author did not send UMI a complete manuscript and there are missing pages, these will be noted. Also, if unauthorized copyright material had to be removed, a note will indicate the deletion.

Oversize materials (e.g., maps, drawings, charts) are reproduced by sectioning the original, beginning at the upper left-hand corner and continuing from left to right in equal sections with small overlaps. Each original is also photographed in one exposure and is included in reduced form at the back of the book.

Photographs included in the original manuscript have been reproduced xerographically in this copy. Higher quality $6^{\prime \prime} \times 9$ " black and white photographic prints are available for any photographs or illustrations appearing in this copy for an additional charge. Contact UMI directly to order.

A Bell \& Howell Information Company
ASSESSMENT OF CONCRETE STRENGTH BY LOK AND CAPO TESTS BY HAMOUD ABDULRAB MOHAMMED BISHR
A Thesis Presented to the
faculty of the college of graduate studies KING FAHD UNIVERSITY OF PETROLEUM \& MINERALS
DHAHRAN, SAUDI ARABIA
LIBRARY -
LHif Fabo university of petroleum a minemals
ohahaan - 31261 . saudi arabia
In Partial Fulfilment of the Requirements for the Degree of

## MASTER OF SCIENCE

CIVIL ENGINEERING
June, 1990

# In 

## UMI Number: 1381110

UMI Microform 1381110
Copyright 1996, by UMI Company. All rights reserved.
This microform edition is protected against unauthorized copying under Title 17, United States Code.

# KING FAHD UNIVERSITY OF PETROLEUM \& MINERALS DHAHRAN, SAUDI ARABIA 

This thesis, written by HAMOUD ABDULRAB MOHAMMED BISHR under the direction of his thesis committee, and approved by all the members, has been presented to and accepted by the Dean, College of Graduate Studies, in partial fulfillment of the requirements for the degree of

## MASTER OF SCIENCE IN CIVIL ENGINEERING

spec

$1018683 / 1018685$

Co-Chairman (Br. G. J. Al-Sulaimani)
$\frac{\text { Mani Ahmed }}{\text { Member (Dr. M. Ahmad) }}$
 - 1.3-6-90
(Dr. G.J. Al-Sulaimani) Department Chairman


Dr. Ala A-Rabeh, Dean
College of Graduate Studies


Date: June 1990


## Dedicated to

My parents and brothers

## ACKNOWLEDGEMENT


#### Abstract

I would like to express my sincere appreciation and deep gratitude to my thesis advisor Dr. I. A. Basunbul for his careful guidance, and constant encouragement throughout this study. I am also thankful to other members of my thesis committee, Dr. G. J. Al-Sulaimani, Dr. A. K. Azad and Dr. M. Ahmad for their useful comments and valuable suggestions.

Acknowledgement is due to the Department of Civil Engineering and KEUPM for extending all the facilities and providing the financial support.


## TABLE OF CONTENTS

List of Tables ..... viii
List of Figures ..... xii
List of Plates ..... xviii
Abstract (Arabic) ..... xix
Abstract (English) ..... $\mathbf{x x}$
CHAPTER 1
INTRODUCTION ..... I
1.1 Gencral ..... I
1.2 Research Significance ..... 4
1.3 Objectives of the study ..... 4
CHAPTER 2
IITERATURE REVIEW ..... 6
2.1 Background of the pull-out tests ..... 6
2.2 Types of pullout tests ..... 17
2.2.1 Type (1) ..... 17
2.2.2 Type (2) ..... 17
2.2.3 Type (3) Tapered bolts ..... 18
2.2.4 Type (4) Epoxy grouted bolts ..... 19
2.2.5 Type (5) Lok-Test ..... 20
2.2.5.1 Development of Lok-Test ..... 20
2.2.5.2 Lok-Test Procedure ..... 21
2.2.6 Type 6 Capo-Test ..... 23
CHAPTER 3
EXPERIMENTAL PROGRAM ..... 39
3.1 General ..... 39
3.2 Scope of Investigation ..... 39
3.3 Materials and Molds ..... 40
3.4 Casting and Curing of specimens ..... 41
3.5 Test Procedure ..... 43
3.5.1 Compressive strength test ..... 43
3.5.2 Core samples ..... 43
3.5.3 Lok-tcst procedure ..... 44
3.5.4 Capo-test procedure ..... 46
CHAPTER 4
RESULTS AND DISCUSSIONS ..... 66
4.1 Gencral ..... 66
4.2 Relationship of Lok strength and age ..... 66
4.3 Relationship of Lok strength and water cement ratio ..... 68
4.4 Relationship of Lok strength and cement content ..... 70
4.5 Relationship of Capo strength and age ..... 70
4.6 Relationship of Capo strength and water cement ratio ..... 72
4.7 Relationship of Compressive strength and age ..... 73
4.8 Relationship of Compressive strength and water cement ratio ..... 76
4.9 Relationship of Compressive strength and cement content ..... 77
4.10 Relationship of Lok and Compressive strength ..... 77
4.1I Relationship of Capo and Compressive strength ..... 78
4.12 Combined Models ..... 80
CHAPTER 5VERIFICATION OF THE PROPOSED MODELS184
5.1 Gencral ..... 184
5.2 Core Strength versus Cylinder Strength ..... 184
5.3 Verification of the Models ..... 186
CHAPTER 6
SUMMARY AND CONCLUSIONS ..... 206
6.1 Summary ..... 206
6.2 Conclusions ..... 206
6.3 Recommendations ..... 208
REFERENCES ..... 209

## LIST OF TABLES

2.1 Corrclation data for sixteen calibrations, (Ref. 8) ..... 2.5
2.2 Corrclation data for cight calibrations relating pullout force to standard cube compressive strength, (Ref. 8) ..... 26
4.1 Experimental data for Jabel Dhahran aggregate at different days and cement contents (Lok and Fc) ..... 82
4.2 Experimental data for Abu-Hadriyah aggregate at different days and cement contents (Lok and Fc) ..... 90
4.3 Relationship of lok strength and age for J. DH. and statistical parameters ..... 98
4.4 Relationship of lok strength and age for Abu-Had. and statistical parameters ..... 99
4.5 Experimental data for Jabel Dhahran aggregate at different days (Lok in kN ) ..... 100
4.6 Experimental data for Abu-Hadriyah aggregate at different days (Lok in kN ) ..... 101
4.7 Relationship of lok strength and WC for J. DH. and statistical parameters ..... 102
4.8 Relationship of lok strength and WC for
Abu-Had. and statistical parameters ..... 103
4.9 Experimental data for Jabel Dhahran aggregate for different $\mathrm{CC}, \mathrm{WC}=0.55$ ..... 104
4.10 Relationship of lok strength and cement content for J. DH. and statistical parameters ..... 105
4.11 Experimental data for Jabel Dhahran aggregate at different days and cement contents (Capo and Fc) ..... 106
4.12 Experimental data for Abu-Hadriyah aggregate at different days and cement contents (Capo and Fc) ..... 112
4.13 Relationship of capo strength and age for J. DH. and statistical parameters ..... 118
4.14 Relationship of capo strength and age for
Abu-Had. and statistical parameters ..... 119
4.15 Experimental data for Jabel Dhahran aggregate at different days (Capo in kN ) ..... 120
4.16 Experimental data for Abu-Hadriyah aggregate at different days (Capo in kN ) ..... 121
4.17 Relationship of capo strength and WC for J. DH. and statistical parameters ..... 122
4.18 Relationship of capo strength and WC for
Abu-Had. and statistical parameters ..... 123
4.19 Relationship of compressive strength and age for J. DH. and statistical paramcters ..... 124
4.20 Relationship of compressive strength and age for Abu-Had. and statistical parameters ..... 125
4.21 Experimental data for Jabel Dhahran aggregate at different days ( Fc in MPa ) ..... 126
4.22 Experimental data for Abu-Hadriyah aggregate at different days ( Fc in MPa ) ..... 127
4.23 Relationship of compressive strength and WC for J. DH. and statistical parameters ..... 128
4.24 Relationship of compressive strength and WC for Abu-Had. and statistical parameters ..... 130
4.25a Experimental data for Jabel Dhahran aggregate for different $\mathrm{CC}, \mathrm{WC}=0.55$ ..... 132
4.2.5b Relationship of compressive strength and cement content for J. DH. and statistical parametcrs ..... 133
4.26 Experimental data for Jabel Dhahran aggregate at different days and WC (Lok and Fc) ..... 134
4.27 Experimental data for Abu-Hadriyah aggregate at different days and WC (Lok and Fc) ..... 136
4.28 Relationship of compressive and lok strength for both types of aggregate and statistical parameters ..... 138
4.29 Expcrimental data for Jabel Dhahran aggregate at different days and WC (Capo and Fc) ..... 139
4.30 Expcrimental data for Abu-Hadriyah aggregate at different days and WC (Capo and Fc) ..... 141
4.31 Relationship of compressive and capo strength for both types of aggregate and statistical parameters ..... 143
5.1 Experimental data for verification of cylinders by coring of Jabel Dhahran aggregate ..... 190
5.2 Experimental data for verification of cyinders by coring of Abu-Hadriyah aggregate ..... 192
5.3 Designation and mix proportions of concrete ..... 194
5.4a Experimental data for Jahel Dhahran (DHI) aggregate for verification of lok ..... 195
5.4b Experimental data for Jabel Dhahran (DHI) aggregate
for verification of capo ..... 196
5.4c Experimental data for Jabel Dhahran (DH2) aggregate for verification of lok ..... 197
5.4d Experimental data for Jabel Dhahran (DH3) aggregate
for verification of lok ..... 198
5.5a Experimental data for Abu-Hadriyah (AB) aggregate for verification of lok ..... 199
5.5b Experimental data for Abu-Hadriyah (AB) aggregate for verification of capo ..... 200
5.6a Experimental data for Ras-Alkhima aggregate for verification of lok and capo ..... 201
5.6b Experimental data for Riyadh aggregate for verification of lok and capo ..... 202
5.7a Experimental data for Ras-Alkhima aggregate
for verification of lok and International models ..... 203
5.7b Experimental data for Riyadh aggregate for verification of lok and International models ..... 204
5.8 Verification of the proposed models.
Data from Rcf.(30) ..... 205

## LIST OF FIGURES

2.1a Relationship between pullout and 7-day compressive strength of $4^{* 8} \mathrm{in}$. cylinders, (from Ref. 2) ..... 27
2.16 Relationship between pullout and 28-day compressive strength of $4^{*} 8$ in. cylinders, (from Ref. 2) ..... 27
2.ic Relationship between pullout and 91-day compressive strength of 4*8 in. cylinders, (from Ref. 2) ..... 27
2.2a Relationship between pullout and compressive strength of 4* $^{*}$ in. cores drilled after 7 days, (from Ref. 2) ..... 27
2.2b Relationship between pullout and compressive strength of $4 * 8$ in. cores drilled after 28 days, (from Ref. 2) ..... 27
2.2c Relationship between pullout and compressive strength of $4^{*} 8$ in. cores drilled after 91 days, (from Ref. 2) ..... 27
2.3 Comparison of relationships obtained in this investgation with those obtained by others, (from Ref. 2) ..... 28
2.4 Relationship between pullout strength and rebound number of 28 days, (from Ref. 2) ..... 28
2.5 Relationship between pullout strength and pulse velosity at 28 days, (from Ref. 2) ..... 28
2.6a Sixteen correlations between pullout force and standard cylinder compression strength, (from Ref. 8) ..... 29
2.6b Recommended correlation between pullout force and
standard cylinder compression strength, (from Ref. 8) ..... 30
2.7a Eight correlations between pullout force and standard cylinder compression strength, (from Ref. 8) ..... 31
2.7b Recommended correlation between pullout force and standard cube compression strength, (from Ref. 8) ..... 32
2.8a Relationship between cube strength and pullout force, (from Rcf. 4) ..... 33
2.8b Relationship between core strength and pullout force, (from Rcf. 4) ..... 33
2.9 Pullout procedure of Type (1), (from Ref. 4) ..... 34
2.10a Pullout assembly of Type (2), (from Ref. 2) ..... 35
2.10b Sketch showing position and dimensions of failure cone, (from Ref. 2) ..... 35
2.11 General arrangement of Tapered bolt pullout assembly Type (3), (from Ref. 6) ..... 36
2.12 View of pullout assembly for Epoxy grouted bolts Type (4), (from Ref. 6) ..... 36
2.13 Lok-tcst procedure for carly stripping of formwork Type (5), (from Ref. 7) ..... 37
2.14 Capo-test procedure for testing hardened concrete Type (6), (from Ref. 7) ..... 38
3.1 Chart of the experimental program ..... 50
3.2 The gradation of fine aggregate ..... $51^{\circ}$
4.1a Relationship of lok strength and age
for J. DH., CC = 300 ..... 144
4.1b Relationship of lok strength and age
for J. DH., CC $=400$ ..... 14.5
4.2a Relationship of lok strength and age
for Abu-Had., $\mathrm{CC}=300$ ..... 146
4.2b Relationship of lok strength and age
for Abu-Had., $\mathrm{CC}=400$ ..... 147
4.3a Relationship of lok strength and WC for I. DH., CC $=300$ ..... 148
4.3b Relationship of lok strength and WC
for J. DH., CC $=400$ ..... 149
4.4a Relationship of lok strength and WC
for Abu-Had., $\mathrm{CC}=300$ ..... 150
4.4b Relationship of lok strength and WC
for Abu-Had., $C C=400$ ..... 151
4.5 Relationship of lok strength and CC
for J. DH., WC $=0.55$ ..... 152
4.5a Relationship of capo strength and age
for J. DH., CC $=300$ ..... 153
4.6b Rclationship of capo strength and age
for J. DH., CC $=400$ ..... 154
4.7a. Relationship of capo strength and age
for Abu-Had., $\mathrm{CC}=300$ ..... 155
4.7b Relationship of capo strength and age
for Abu-Had., $\mathrm{CC}=400$ ..... 1.56
4.8a Relationship of capo strength and WC for J. DH., CC $=300$ ..... 157
4.8b Relationship of capo strength and WC
for J. DH., CC $=400$ ..... 158
4.9a Relationship of capo strength and WC for Abu-Had., $\mathrm{CC}=300$ ..... 1.59
4.9b Relationship of capo strength and WC
for Abu-Had., $C C=400$ ..... 160
4.10a Relationship of compressive strength and age
for J. DH., CC $=300$ ..... 161
4.10b Relationship of compressive strength and age for J. DH., CC $=400$ ..... 162
4.11a Relationship of compressive strength and age for Abu-Had., $\mathrm{CC}=300$ ..... 163
4.11b Relationship of compressive strength and age for Abu-Had., $\mathrm{CC}=400$ ..... 164
4.12a Relationship of compressive strength and WC for J. DH., CC $=300$ ..... 165
4.12b Relationship of compressive strength and WC for J. DH., CC $=400$ ..... 166
4.13a Relationship of compressive strength and WC for Abu-Had., $\mathrm{CC}=300$ ..... 167
4.13b Relationship of compressive strength and WC
for Abu-Had., $C C=400$ ..... 168
4.14 Relationship of compressive strength and CC for J. DH., WC $=0.55$ ..... 169
4.15a Relationship of compressive strength and lok strength for I. DH. ..... 170
4.15b Relationship of compressive strength and lok strength for J. DH., $\mathrm{CC}=400$ ..... 171
4.15c Relationship of compressive strength and lok
strength for J. DH., $\mathrm{CC}=300$ ..... 172
4.16a Relationship of compressive strength and lok strength for Abu-Had. ..... 173
4.16b Relationship of compressive strength and lok strength for Abu-Had., $\mathrm{CC}=400$ ..... 174
4.16c Relationship of compressive strength and lok strength for Abu-Had., $\mathrm{CC}=300$ ..... 175
4.17a Relationship of compressive strength and capo strength for J. DH. ..... 176
4.17b Relationship of compressive strength and capo strength for J. DH., CC $=400$ ..... 177
4.17c Relationship of compressive strength and capo strength for J. DH., CC = 300 ..... 178
4.18a Relationship of compressive ṣtrength and capo strength for Abu-Had. ..... 179
4.18b Relationship of compressive strength and capo
strength for Abu-Had., $\mathrm{CC}=400$ ..... 180
4.18c Relationship of compressive strength and capo strength for Abu-Had., $\mathrm{CC}=300$ ..... 181
4.19a Relationship of compressive strength and lok strength for all data of .J. DH. and Abu-Had. ..... 182
4.19b Relationship of compressive strength and capo strength for all data of I. DH. and Abu-Had. ..... 183

## LIST OF PLATES

3.1 Wooden mold for casting panels ..... 52
3.2 Coring machinc ..... 53
3.3 Lok inserts are fixed before casting ..... 54
3.4 Position of lok inserts on panel ..... 54
3.5 Stem handle turning stem out of concrete ..... 55
3.6 Bolt handle used to thread pullbolt to dise ..... 5.5
3.7 Parts of the assembly of lok-test ..... 56
3.8 The pulling heads of the lok-test instrument ..... 56
3.9 Lok-test instrument locking to the coupling ..... 57
3.10 Lok-test instrument ..... 57
3.11 Concrete surface after a completed lok-test ..... 58
3.12 Concrete surface after the failure ..... 58
3.13 Tools used for capo-test ..... 59
3.14a Drill-machine during the operation ..... 60
3.14b Removing the core by the tweczers ..... 60
3.15 The diamond miller ..... 61
3.16 Technique used to make a groove in concrete ..... 62
3.17 The expansion unit assembly ..... 63
3.18 Capo insert is expanded to fill the groove ..... 63
3.19 The expansion unit before attaching to the lok-test instrument ..... 64
3.20 The failure cone of capo-test ..... 65

## 

من الـــلـوم ان مقاومة الـخرسانـه في الممنتآت تختـلف عن مقاومة الــنط للـعينات المجهـزة ونتيجة لـللك تزايـ الطلب من أجــل ايجــــــاد طرق أخـــــرى عملية ودقيقة ، لتحديد نـوعيـــــة وقوة الـخرسانه ممـا أدى الي تططوير الـاليب حديثة لتقييم خواص الـخرسـانة • من هذه اللطرق أختبـــار شد الاقراص الـمعنيـية والـذى


النـوع الاول و يتطلب ونع القرص الـمعنـي في الــدة الـخثبية قبل الــب ( لـوك ) والنوع الثـنـي يمكن اجرا وهو
 القرص الــــدني الـــوضوع في الـخرسانه •
 هذه الاختبـارات لا يجـاد مقاومة الـخرســـانـه في الـموقعوكنللك لتتطوير نمــاذج تقديــر قــوة الخرســانه باستعمال اختبـار (لـول ) واختبار (كابــو) • وهنــاك متغيرات مهمة تم دراسة تأثيرها علي هذه النــــــج مثــل الزمــن ، نــــبة الـما ، لـلا سـسمنت كمية الاســمنت ، نـوع الـحصي الـخثن • والـعينــات المـــتخدمة للدراسة عبارة عن صبيات خرســـــانيـة بـــك • 10 مليمتــــر وكذلك اســطوانـات يبلغ قطــر الـواحــد منـها YO مليمـــــتر بالاضـافــة الـي القلوبا الـخرسـانية الـمأخــوذة من هذه الــبيـــات •
 مقاومة الخرســانـة ، وكنللث رســـم الـعلا قات بين كل مـن اللـوك ، الكابـو و مقــــاومة الـخرسا نـه النـاتجــة مــن اختــبار الاسطوانـات الــــــبـة • وكنلك تم التحقق من محة ومدى الا عتمــاد علـي هذه النـمـاذج الـمقترحة و ذللك عن طريـق مقارنه قوة الـخرسانـه المتوقعة مع الـقوة للفعليـــــة للخرسانه .


#### Abstract

NAME : HAMOUD ABDULRAB MOHAMMED BISHR title : ASSESSMENT of concrete strength BY LOR AND CAPO TESTS.

MAJOR FIELD : CIVIL date of degree : June 1990

It is recognized that strength of concrete in structures is different than strength of control specimens, therefore an increased demand for more precise and more practical methods of in-situ assessment of concrete quality had led to the development of a large variety of techniques to evaluate concrete properties, such as strength, durability and quality control.

Pullout testing of concrete is one of these techniques which divides into two basic categories; the first one has an insert which is cast into the concrete (lok-test), the other has an insert fixed into a hole drilled into the hardened concrete (capo-test).


$$
-x \times-
$$

The purpose of this study is to verify the accuracy and reliability of lok-test and capo-test methods for estimation of in-situ compressive strength of concrete made with commonly used local materials, and to develop the necessary calibration curves between pullout force and standard compressive strength for various types of aggregates, cement contents and water cement ratios.

Based on a regression analysis of the generated data, effects of the previous variables on the behavior of strength have been studied and the calibration curves developed.

The proposed models have been verified for their reliability by comparing predicted strength with the actual strength.

MASTER OF SCIENCE DEGREE<br>KING FAHD UNIVERSITY OF PETROLEUM AND MINERALS<br>Dhahran, Saudi Arabia

June 1990

$$
-x x i-
$$

## CHAPTER 1

## INTRODUCTION

### 1.1 General

The structural quality of concrete is not easily controlled since it is greatly affected by the quality and proportioning of its component materials and by the environmental conditions under which its curing takes place. Compressive strength is an excellent indication of concrete quality and it forms the most important basis of a specification, as many other properties of concrete are directly or indirectly related to it.

In the standard method for determining the strength of concrete, specimens of the hardened material are tested to failure in compression, with the specimens prepared from fresh concrete samples. The standard compressive strength test undoubtedly constitutes an excellent means for quality control of concrete. In addition, it is commonly use to estimate other mechanical properties of concrete such as tensile strength, modulus of elasticity ...etc. However, the standard compressive strencth has some limitations. Briefly, these consist of inherent errors in sampling
and the fact that concrete in structure is placed, compacted ,transported and cured differently from that cast in cylinders or cubes.

To overcome the limitations of the standard strength test, considerable effort has been made in the past to develop other testing methods, particularly of a non-destructive nature, that would permit the evaluation of quality of concrete and its behaviour in the structure.

Over the past few decades, nondestructive testing of concrete has received increasing acceptance for evaluation of strength, properties and uniformity of in-situ concrete; such testing has been necessary either as part of a quality assurance program or as part of a diagonistic evaluation of the causes of concrete problems with regard to durability, cracking and compliance to a prescribed specification.

The nondestructive testing methods provide an effective way of obtaining considerable amount of test data at a relatively little cost and short time, which is considered to be a major advantage. Although nondestructive tests are relatively simple to perform, the analysis and interpretation of the test data are not so easy because concrete is a complex material, so
the interpretation of the test data must always be carried out by specialists in this field.

For the past 30 years work has been going on to find methods permitting determination of in-situ strength of concrete in the structure itself. One method which has been found to be an acceptable to many of the concrete testers is the pullout method. The pullout test measures the force required to pull out test bolts embedded in the structure, after which an empirically established relationship is used for conversion of the measurements to the cylinder compression strength of the concrete.

### 1.2 Research Significance


#### Abstract

A need for a reliable non-destructive method to determine in-situ concrete strength with a minimum damage and to satisfy simplicity of application, less cost, fast operation and direct measurements of strength. Also to establish pullout and compressive strength relationships by using local materials for the mixes.


### 1.3 Objectives of the study

ASTM and other specifications require that calibration curves for $10 k$ and capo tests should be developed for local materials and environmental conditions to convert their measurements into in-situ equivalent concrete strength. The overall objective of this study is to make use of the statistical analysis to develop calibration curves for converting Lok and Capo test measurements to equivalent conventional concrete strength. Data are generated in the laboratory from application of lok and capo tests on concrete panels and concrete cylinders made with different aggregate types and materials proportions. The main objectives of this research are as follows:
(1) To verify the accuracy and reliability of lok-test and capo-test methods for estimation of in-situ compressive strength of concrete made with commonly used local aggregates.
(2) To develop the necessary calibration curves between pullout force and standard compressive strength for various types of aggregates, cement contents and water cement ratios.
(3) To undertake an elaborate experimental program to generate sufficient amount of test data of lok and capo test for the purpose of modelling.

This study is being restricted to laboratory tests on standard 75 * 150 mm ( 3 * 6 in.) cylinders and 750 * 500 * 150 mm panels of concrete made from Jabal Dhahran and Abu-Hadriyah crushed aggregate, which are typical of Eastern Province coarse aggregates. The maximum size of coarse aggregate is 20 mm ( $3 / 4$ in.), different watercement ratios, and cement contents will be used.

## CHAPTER 2

## LITERATURE REVIEIV

### 2.1 Background of the Pull-out Tests

It is increasingly being recognized that strength of concrete in structures should be measured by in situ testing. Hence, an increased demand for more precise and practical methods to assess concrete quality has led to the development of a large variety of techniques to evaluate concrete properties, such as strength, durability and quality control.

These techniques attempt to measure some of the properties of concrete from which an estimate of strength, durability and its elastic parameters are obtained. Based on properties such as hardness, resistance to penetration, and the propagation of the ultrasonic pulse, various nondestructive methods of testing concrete have been developed such as rebound method, penetration techniques, pulse velocity methods and pullout test. In recent years, a combined methods approach (22) in which more than one nondestructive method is used to estimate strength of concrete have been proposed to increase the degree of reliability.

Of the nondestructive tests available, the pullout tests appear to have the best potential for acceptance as a measure of the compressive strength of in-place concrete. The pullout techniques, which are relatively new, are specially designed for in-situ testing of concrete and, unlike most other non-destructive methods, offer the advantage of direct determination of some strength parameters. In addition, these techniques show a good degree of correlation with the standard strength. Briefly, the pullout tests measure the force required to pull an embedded anchor plate out of the concrete. Because of the shape of the pullout assembly, a small cone of concrete is extracted (9).

Pullout testing of concrete is used to determine the strength of concrete placed and cured under actual field conditions. It has the advantage once the concrete has reached a specified strength level so that, for example, post-tensioning may take place, forms or shores be removed, winter protection terminated.

Pullout testing is also used to evaluate dubious structural elements prior to repair or load testing, . and to check the joint effects of fresh concrete transportation, casting, consolidation, ambient
temperature, and curing condition, on the structure by comparing the in-situ strength and variation with the results of standard compression tests as measured at the ready-mix plant under ideal laboratory conditions (8).

Pullout testing is not a recent development. It has been in use in USSR since 1935 (4). In the early 1970's, Richard and Malhotra published data on tests made with apparatus based on designs by Richard. In 1973 the North Carolina State Highway Department carried out some pullout tests. In 1977, as part of a National Research Council of Canda a study had been made by Bickly(1). The pullout test has been standardized in USA, where ASTM published a test method c900-78 for determining the pullout strength of concrete (28). During the years 1960-70, P.Kierkegaard-Hansen (Denmark) developed the Lok-test method, and many years ago, C.Germann Petersen (Denmark) developed the so-called Capo-Test.

Several studies $(2,16,18,20,29,30,31,32)$ show that a significant correlation exists between the compressive strength of cylinders cured under standard conditions and the pullout $\varepsilon$ trength of concrete. It is found that for the same concrete mix, the pullout
strength increased with increasing age, indicating the possible usefulness of these tests for comparative studies.

Other studies have been performed to determine the concrete material properties which are measured by the pullout force. One of them was made by Malhotra and Carette (2), in which they presented comparisons of pullout strength of concrete with compressive strength of cylinders and cores, pulse velocity and rebound number. In this study, the water-cement ratio was varied from 0.36 to 0.70 and the corresponding cement contents varied from 845 to $390 \mathrm{lb} / \mathrm{cubic}$ yd. for each mix, one 24 * 24 * 12 in. (610 * 610 * 305 mm ) concrete block, nine 4 * 8-in. cylinders, and three 6 * 12 in. cylinders were cast. The pullout tests on the concrete blocks were made at 7,28 , and 91 days. The blocks were also subjected to tests by the Schmidt rebound hammer, and pulse velocity measurements were taken. In addition, $4 * 8$ in. cores were drilled from the blocks at the above ages. The cores along with the companion moist-cured test specimens were tested in compression (2).
at 7,28 , and 91 days, three 4 * 8 in. cylinders were capped with a sulfur and tested in compression; at

28 days, three 6 * 12 -in. were also tested in compression. Before.capping, the pulse velocity was measured through the cylinders with pulse path being 12 in.

The relationships between the pullout strengths, compressive strengths of cylinders and drilled cores, rebound numbers and pulse velocity together with other comparisons are shown in Fig. 2.1 to 2.5, Where possible regression lines have been fitted to the test data.

Malhotra and Carette reported that the state of stresses in the pullout test is difficult to analyze and the magnitude of strengths obtained in this test indicates that perhaps the test measures the direct shear strength of concrete.

By using Coulomb's criterion for sliding failure, Jensen and Braestrup (23) showed that the pullout force is directly proportional to the compressive strength of the concrete.

By a finite element analyses of the failure mechanism Ottosen (10) concludes that large compression forces run in a rather narrow band from the embedded disc towards the reaction ring, so that the failure is caused by crushing of the concrete, not by cracking,
which means that the pullout strength depends on the compression strength.

Bickley in his study (2) concluded that there is a high degree of correlation between the pullout force and the compressive strength, and stated that it is likely that the pullout test measures a property of the concrete that is either the compressive strength itself or that has a constant relationship with this.

Stone and Carino (11) conducted an experimental study using a large-scale pullout test, and concluded that the failure occurs in the form of shear failure of the matrix and aggregate interlock, starting at about $80 \%$ of the ultimate load.

According to krenchel and Petersen (8), there is no doubt that the failure in a Lok-Test and a Capo-Test is a compressive failure; the straight-lined correlations clearly indicate this, but the stress propagation during pullout is probably complex, involving triaxial compressive stresses.

In a test program conducted in 1975 (16), the lokstrength was compared with the Capo-strength in the surface of a 20 cm slab. On the basis of 20 tests of each type made on concrete with 16 mm maximum size sea gravel aggregates, it was found that the average
pullout-forces were 25.9 kN for lok-test and 24.1 kN fol: capo-test with coefficients of variation of 4.6 and 5.3 , respectively.

In 1979, the Structural Research Laboratory of the Technical University of Denmark (16) conducted a research project to evaluate the reliability and reproducibility of the Capo-Test relative to Lok-Test and to the cylinder compressive strength. It has been found that a straight line relationships between loktest or capo-test and cylinder compressive strength with coefficients of correlation of .96 for both tests. A survey by Krenchel and Petersen (8), on the basis of a total of 24 major calibration series carried out in Denmark, Canada, USA, Sweden, Norway, and the Netherlands, was conducted and they found that calibrations to cylinder compressive strength and to cube compressive strength are unaffected by such variables as water-cement ratio, type of cement, age, curing conditions, form, size and source of aggregates, air entrainment, and admixtures. They also stated that the calibration curves obtained in their study demonstrate great stability from laboratory to laboratory, from site to site, and from country to country.

They summarized all calibrations made up to 1984 in Table 2.1, giving author, year of publication, number and type of reference specimen, number and position of pullout test, variable investigated, correlation found between pullout force and cylinder strength,maximum aggregate size, standard deviation and coefficient of variation, and coefficient of correlation.

Eig. 2.6a shows the correlations given in Table 2.1, and Eig. 2.6 b shows the recommended calibration between pullout force and the cylinder compression strength. The calibration equations are:
(1) $P=0.96 E_{C}+1.00 \quad$ for $2 \mathrm{kN}<\mathrm{P} \leq 25 \mathrm{kN}$
(2) $P=0.8 E_{c}+5.00 \quad$ for $25 k N<P \leq 65 k n$

Where the pullout force $P$ is measured in $k N$ and the cylinder strength $\mathrm{E}_{\mathrm{C}}$ in MPa (8).

Also Table 2.2 summarizes the major calibrations developed by many researchers, comparing pullout force to 150 mm cube compressive strength. Eig. 2.7a illustrates the correlations found, and.fig. 2.7 b gives the recommended calibration, together with the 95 confidence limits The recommended equation has been found to be:
for $3 \mathrm{kN}<\mathrm{P} \leq 65 \mathrm{kN}$

Where the pull force $P$ is measured in $k N$ and the cube strength Ec in MPa.

In a study (2), Malhotra had investigated the relationship of the pullout strength to the strength of the companion cylinders only and concluded that the pullout test is satisfactory for estimating the strength of in-situ concrete at both early and late ages and this test is superior to many nondestructive tests because a greater depth and volume is tested.

Bickley (12) discussed the use of pullout testing to achieve safety and economy in construction. He stated that pullout testing can provide an economic way of obtaining adequate numbers of tests from which statistically valid calculations can be made.

A comparative study (18) of five nondestructive apparatus for testing hardened concrete in place had been made by Nasser and Al-Manaseer. The apparatus are the pullout tester, the rebound hammer, the ultrasonic pulse velocity and the penetration probe. They found that linear and power regression equations were best suited to fit most of the data and to relate it to the compressive strength of the concrete.

Khoo (4) in his study presented of investigation on a pullout technique for the determination of in-situ strength of concrete. a minimum of twelve $150-\mathrm{mm}$ cubes and two 600-mm cubical blocks were made from each of five mixes. In this study, a total of two hundred and seventy-six pullout tests were performed together with one hundred and thirtyfive $150-\mathrm{mm}$ standard cubes and ninety-two cores. At each age, six pullout tests and two cores tests were made at the same elevation on the cubical block and their respective averages calculated. The corresponding cube strength was obtained by taking the average of three cube strengths. The relationship between the pullout force and the compressive strengths of $150-\mathrm{mm}$ cubes and $100 * 200 \mathrm{~mm}$ drilled cores are shown in Fig. 2.8a,2.8b . The pullout test results obtained indicated good correlation with the strength results obtained on drilled cores and standard-cured cubes.

Krenchel and Bickley (21) performed a study by using different pullout systems and examined the stress-strain distribution inside the concrete. They reported that the internal rupture pullout test is a multi-stage process, where three different stages can be identified. In the first stage, tensile cracks are formed starting from the upper edge of the pullout disc. A multi-micro cracks from compression straining are formed in the second stage, the
main direction of these cracks running from top of disc to bottom of counter pressure ring forming a cone. The third stage of internal rupture occurs by forming a tensile/shear crack running from the outside edge of the disc to the inside edge of the counter pressure ring and forming the cone failure surface.

Petersen and Hansen (27) performed a study by using the Lok-Test and the Coma-Meter, they concluded that the developed system combining pullout testing and maturity measurements proved to be a reliable and economical solution to the problem of achieving sufficient knowledge of the insitu strength when rapid construction schedule is of importance.

Johansen and Einar-Dahl (19) performed a study to evaluate the ability testing methods (Lok-Test and TNS test) to detect variation in concrete quality and curing conditions. They stated that Lok-Test demonstrates a better ability to differentiate between concrete qualities, and both tests can be used to test young concrete.

### 2.2 Types of pullout techniques

Pullout tests are divided into two basic categories: the first one has an insert which is cast into the concrete; the other has an insert fixed into a hole drilled into the hardened concrete. Some of these types are as follows:

### 2.2.1 Type 1 (Ref. 4):

The pullout inserts are machined from high tensile steel material. The inserts are held in the wooden moulds by tightening the nuts and washers on threaded shafts. The embedded head of the insert has a diameter of 25 mm and the distance between the inner surface of the embedded head and the inside of the formwork is kept constant at 25 mm . The embedded insert is pulled out of the hardened concrete by means of a loading system. The sequence of performing a pullout test is illustrated diagrammatically in Eig. 2.9.

### 2.2.2 Type 2 (Ref. 2):

The pullout assembly consists of a threaded steel shaft $3 / 4$ in ( 19 mm ) in diameter and 4.25 in . ( 107 mm ) long together with a 2.25 in. ( 57 mm ) ${ }^{*} 1 / 8$ in ( 2.8 mm ) thick washer which was to serve as the embedded head. The assembly is held in position in the formwork by nuts and washers as
shown in Eig. 2.10a . The critical dimension are the diameter of the washer and the distance between the bottom of the washer and the inside of the formwork. This distance is kept constant at 2.08 in (52.8mm). The steel shaft and the embedded head are pulled out of the hardened concrete by means of a hollow tension ram which exerts pressure through a bearing ring with an inside diameter 5.0 in (127mm) and thickness $1 / 2$ in (12.5mm). The inside diameter of the bearing ring, the outside diameter of the embedded head, and the distance between them control the size and the apex angle of the concrete cone that will be pulled out Eig. $2.10 b$. Great care should be taken to ensure that the height " $h$ " is kept constant in each assembly. All threaded shafts, washers, and nuts are cleaned to ensure a satisfactory bond between steel and concrete.

### 2.2.3 Type 3 Tapered bolts (Ref. 6):

This type consisted of pulling out a tapered bolt that had been forced by means of a calibrated torque into a special threaded sleeve positioned in a drilled hole in the concrete Fig. 2.11. The sleeve, which has an external diameter nearly equal to that of the drilled hole, consists of two semi-circular parts held together by rings and designed to fit the tapered bolt. The sleeve is first placed
in the upper part of the hole, ensuring that there is no differential displacement between the two components. The tapered bolt is then screwed into the sleeve and the assembly carefully brought down the hole with a hammer. The bolt is subsequently removed and tension ram and its support are put in position for the test. The bolt is reinserted into the sleeve through the tension ram and again partly tightened till lightly retaining the whole assembly. The test is performed and recording the force required to pull it out with the ram simultaneously pulling out a section of the concrete.

### 2.2.4 Type (4) Epoxy grouted bolts (Ref. 6):

This technique consists of pulling out a bolt set in the hardened concrete with an epoxy. The method and the details of the equipment are illustrated in Eig. 2.12. The drilled hole is carefully cleaned and dried to filling with a flowing epoxy. The bolt, a threaded steel rod, is placed into the epoxy with a slow rotary motion. During the initial stage of hardening of the epoxy, a support is needed to hold the bolt perpendicular to the surface of the slab. After proper curing of the epoxy, the bolt is pulled out using a tension ram assembly, with the load being applied uniformly till failure of the concrete occures.

### 2.2.5 Type (5) Lok-test (Ref. 7)

### 2.2.5.1 Development of Lok-Test:

The Danish Society of Chemical, Civil, Electrical and Mechanical Engineers appointed a working committee on concrete control in 1959. The task of the committee was to prepare proposals for bringing up to date the Code of Practice for the Structural Use of Concrete(15). The committee agreed that one of the fundamental problems of concrete control was that strength requirements were made to the concrete in the structure, while the control was carried out on cast test specimens. Only by measurements on the structure itself it would be possible to check that important factors such as the transport of the fresh concrete, casting, compaction and curing. Then the committee proposed a control method with the following characteristics: the method should have the character of a destructive method, and it must be cheap; the measurements must be easy to carry out and they should be made on the concrete in the structure.

In 1962, Kierkegaard-Hansen devised the method that is known today as Lok-Test. Its name is taken from the Danish word "Lokning". The first invest-igations were carried out in August 1962 in Dr. Anders Nie.sen's laboratory. In 1963,
work began on the development of special laboratory apparatus. From then until 1966, The Danish National Institute of Building Research carried out a large number of tests. From 1967 to 1968 the method was tested in practice. In 1969 the Danish Society of Civil Engineers requested the Department of Structural Engineering of the Techanical University of Denmark to carry out a number of control tests. Investigations made in 1969 to 1970 verified the correlation between the cylinder compression strength of the concrete and the lok strength.

Many investigations have been carried out to arrive at suitable dimensions for the test apparatus, where the diameter of the pullout disk, the depth of embedment and the diameter of the support ring were selected so as to obtain a linear relation between the pullout load and the corresponding independently measured uniaxial compressive strength (14).

### 2.2.5.2 Lok-Test Procedure:

The lok-test is a test where a solid part is extracted from the concrete by means of an embedded disk which is pulled out under application of a counterpressure.

The pull-out insert is a 25 mm diameter special steel disc held 25 mm from the testing surface by a removable
shaft, which may be attached to the formwork using a circular hardboard plate nailed into place, or through the formwork using an adjustable screw Eig. 2.13a. It can also be placed in unformed surfaces of concrete using a floatation cup or steel plate.

During testing, all parts of the insert except the disc are removed Fig. 2.13b. A special pullbolt is threaded into the disc and attached to the testing instrument. A handpowered hydraulic precision pulling machine, which has a 55 mm dia. counterpressure ring placed centrally on the testing surface Fig. 2.13c. Pulling force is applied by turning the instrument handle. The equipment automatically ensures correct centring and constant correct loading perpendicular to the testing surface.

A small cone between the disc and the counterpressure ring is released, and the pulling force is recorded. If the measurement indicates that the in-place strength of concrete is in excess of the specified strength, the test could be stopped without any visible damage to the structure. Alternatively, load may be applied untill compressive failure of the concrete and, if released immidately afterwards, only slight damage occurs to the concrete Fig. 2.13d. The instrument and the pulling bolt are removed, and the stem(the removable shaft) is reinserted in the disc
leaving the surface almost untouched.

### 2.2.6 Type(6) Capo-test (Ref. 7):

The lok-test does not work when concrete strength of already built structure need to be found. For this purpose a special undercutting and subsequent expanding ring technique was developed. In this way the mechanism of failure would be the same as that of lok-test. It's name is derived from Cut And Pull-out test.

In this test, the reinforcement is located with a covermeter or a simple metal detector and the testing surface is ground smooth and flat with a heavy grinder in a 100 * 100 mm area. A hole is cut perpendicular to the surface with a special tool 18 mm in diameter, to a depth of 50 mm at least 20 mm from reinforcement position, and afterwards undercut with a diamond miller to a 25 mm hole positioned 25 mm from the concrete surface, to a depth of 10 mm.

An expanded insert is placed in the hole and is expanded with a special expansion unit Fig. 2.14 b to ensure a correct circumferential connection between the expanded insert and the undercut groove surface. The unit and the insert are attached to a pullbolt, which is coupled to a lok-test instrument with a counterpressure ring placed on
the testing surface and loaded. The CAPO strength is recorded as the maximum reading during pull-out, which in this case is always continued to past failure untill the cone of concrete is removed Fig. 2.14d. Since the Capo apparatus consists of several individual components it may require more assembly time and care.

Capo-test has been in use in Denmark on a number of sites. It takes approximately 10 minutes for one test provided the necessary electricity and water supply in present. The capo-inserts are reusable two or three times. The portable equipment, all kept in two small suitcases, makes it possible to carry out a large number of tests.

In order to get consistent data for pullout test, it is very important that the investigator understands the limitations of the test procedure and its application.

| 4llimas ifro. your of achs.an? | INOMSEO ANE © APANSE AND ! SAFA: <br>  <br>  |  |  |  |  | $n a x$$3 \cos$1$m m:$ |  <br>  ANow fore Fitar smerin |  |  |  |  |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
|  |  |  |  | $\begin{gathered} 1 \\ I \times N X \end{gathered}$ | $4$ |  | ? |  |  |
| $\text { GAY }=18 \mathrm{rt}$ | (1) te eyrmars camor | 46 or cyumor Sopaby | icoms |  |  |  | +5-00! | 18 | Q.S | 5\% | CS |  | 39 |
| Aryin ja 18. 89 |  : |  t eothors |  | Pagof-av | ctiol | 0 <br> 80 | $\begin{aligned} & 20 \\ & 1 \% \end{aligned}$ | 4. | 25 |  | 09 |
| KRENCHE: M (U) s. 8 | (3) 75 cipmaris | 32 an wriner tri ices of anm i ; curar mom lors |  | $\left.\right\|_{i} ^{p, 0.02 x \cdot-197}$ |  |  | JJ | 9. | 18 | 60 | $\infty$ i |
|  30 | (4) 5 eyinoters | imon mrical bit :ces of 200 mm : tcubes. two in foosh |  |  |  | \% 8 | 1 | $5{ }^{\circ}$ | LE | 45 | 0.8 |
| KRENCMEL. H. (M) 1570 | (5) ; 250 cylugure | !500 3 n miticor loces of 200 mm cubes. no menc |  |  | $\begin{array}{r} 1 \\ 0.500 \\ \end{array}$ | $69$ | 36 | $\leq 2$ | $17$ | 13 | C.9 |
| JENSEN. JXJ (TS) 976 |  | ! 96 an one meri! \|col tere of | +re. |  | $5-5$ | $6$ | 29 | 55 | 26 | 66 | 0.56 |
| DRAESKA (5) 1807-82 |  | Isi on verticat ! cos of 200 mm ! cubes. $\operatorname{cght}^{\prime \prime}$ locs |  | $\frac{3}{6}$ | \| | $08!$ | 17 | 7.7 | $0 \cdot$ |  | as |
| $\begin{aligned} & \text { Denke KD (E) } \\ & \text { seaf } \end{aligned}$ | (8): 5 grimes. $\left\{\begin{array}{l}1 \mathrm{~mm} \text { roch mex. } \\ \text { eapped }\end{array}\right.$ | $x$ on urdicet to ces of 200 mm cubes. tor anso | cirng Pne | $\mathrm{P}_{\mathrm{r}} \mathrm{C}$ 60-1-17.3 | 300-76 | 22 | Nat | N/ | ner | ALS | 08 |
| $\begin{aligned} & \text { AOUSEN. PE (77) } \\ & \text { g73 } \end{aligned}$ | (9)! $x$ cotims (a)cham) IN-SITU | 25 an mitical to ca of orother 2 colurive | roto | $\mathrm{Pr}_{2} \mathrm{QNJJ}-1-5.50$ | $100-12$ | 8 | 27 | $17 \%$ |  |  | 0.65 |
| CLRICGMRO-SNOTN <br> Nadman 1973 | C) $\times$ cyindirs | of on cyinoter bofters |  | $\mathrm{C}_{2} 0.006 \%$ | 85-30) | d. 6 | 18 | 60 | 40 | 16 | 0.98 |
| $\begin{aligned} & \text { LEKSOR. } 58 \mathrm{R} \pi \\ & 15 \% \end{aligned}$ | (it) $2 \times 0$ cyinders | $J 60$ an paroi bortoms | $\begin{aligned} & \text { net } \\ & \text { roto. } \\ & \text { ospe } \\ & \text { sper } \end{aligned}$ | 8 c | 20050 | 28.12 | $\nu$ | H | 24 |  | 09 |
| 4RK5OC. 5 (20) 185 | (12): 240 eydinders IN-gTV | $\qquad$ |  | P-arro-6-70\| | 20035 | 2ax | 45 | E4 | 24 | S* | ars |
| KRSMCHLS. H (2I) 1582 | (1) 146 cisincters | !26 an wricol bi ces of 200 mm cudel torm. |  |  | 3070 | $\left\|\begin{array}{c} 6.8 \\ \text { and } \\ 2 \end{array}\right\|$ | 27 | 2 | $\psi$ | 16 | ! 28 |
| $\begin{aligned} & \text { KREMCHKL, H } 121 H \\ & 196 ? \end{aligned}$ | (A) 116 cypinders | 24 an mertico to cas of 200 mon cubed hom om |  |  | 50-750 | $\left\|\begin{array}{c} 8.5 \\ 0 \mathrm{mf} \\ 52 \end{array}\right\|$ | 2.1 | 28 | 21 | 15 | as |
| MECK.RL 123 98 | (B) 36 cylinows copare | 42 sold. 故 on cylinoter sorfort ord at an motio col foces (c) of 200 mm aches | cirmy $\left\|\begin{array}{l}\text { forme } \\ \text { ond } \\ \text { not. } \\ \text { ratio }\end{array}\right\|$ | $\left.P_{l} l \cos -f_{c} \cdot 100\right]$ | 63-3<5 | 8 | 25 | 0 | $\boldsymbol{V}$ | 6 | (0\% |
| orcier ya czy 5 | (6) 672 cijonders conger | 472 on cyloner solfons | $\begin{aligned} & \text { logene } \\ & \text { logy se! } \\ & \text { re Am: } \\ & \text { source } \\ & \text { ond } \end{aligned}$ |  | 29-464 | fs | 24 | 22 | 27 | 3 | \% ass. |

Table 2.1
Correlation data for sixteen calibrations relating pullout force to standard cylinder compression strength, Ref. (8)
(8) ' jay 'yziurats an!ssarduos aqns paepuets of aכsof 7 nolind suilejed


| 101.00 |  |  |  |  |  |  |  O1 101 ע/ pullifo so |  |  |  <br> burpas תנו |  |  |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| 060 | $0 \cdot 5$ | 02 | 55 | 02 | م'a | 059.0\% | 997: |  | you ul 5 Unusi 10 201 posiljan vosc |  | (12) |  |
| 060 | 0 s | 02 | or | 02 | $\mathrm{CO}^{\prime} \mathrm{C}$ | 0sp.0r | $\text { 00\% : } 3 \cdot 50<0 \times{ }^{7}$ |  |  |  | (c) |  |
| VNN | 09 | 97 | c9 | 92 | S'S | 100.00 | Irr:3.szcord |  |  | Nu0d 4200 57003 On | (2) |  |
| VN | 5 Cl | 09 | 011 | C* | cos | 00300 |  |  |  |  | (12) |  |
| $\infty 0$ | 56 | or | 05 | * | * | Dos-088 |  | $\left\|\begin{array}{c} \text { owin } \\ \text { 6umm } \end{array}\right\|$ |  | rame 05 | (a) | (921) NJONIM 20060 |
| 50 | Op | rr | 58 | $\boldsymbol{s}$ | т's' | ortor | 051:3.200? ${ }^{\text {a }}$ |  | UnU OSI 10 200 1031/Jon wo SL | sagm 4 | (61) |  |
| 580 | 99 | 25 | 08 | cr | ar | pro.0a | $1002: 3 \cdot 080 \div 8$ | suifnol |  munooz aro paive mal sagn und on 102001 10xpmen wo 041 | [Jqno 091 | (11) |  |
| 900 | $0 \%$ | s\% | 58 | $\pm 2$ | 01 | orcos | 02103. $0020{ }^{3}$ |  | 6. 1 20\%1/ 'гf Guypollj incod م 100064105 | mampromes 59 | (11) | (ty) y nonvilior |
| $\begin{gathered} N 011 \\ -v 188 \end{gathered}$ | $\begin{gathered} (x) \\ 1 \end{gathered}$ | $\begin{gathered} 14 / 10 \\ \hline \end{gathered}$ | $\begin{gathered} \hline 1 \% 1 \\ 1 \\ \hline \end{gathered}$ | $\begin{gathered} (N *) \\ 8 \end{gathered}$ | new) | (4)N | $\begin{array}{cc} \hline \text { (4/WI } & (\mathrm{NH}) \\ \hline 3 & d \\ \hline \end{array}$ | $\begin{array}{r} 071 \\ 49 / 15 \end{array}$ |  | SN3W |  | Gulurimgnd min now |
| . 20310 | Y/buer |  | $020$ | $\operatorname{moy}$ | 3215 |  |  | '3ant | SLS31 1 dnoind | IJJdS DNJ8 | ON | (10) yorıar |
| $\left.\begin{array}{\|c} 1 N 310 \\ -181300 \end{array} \right\rvert\,$ | NOILII\&VA 10 INJDIAJ302 <br> ont noisiazo orronys |  |  |  | $\begin{gathered} 8097 \\ x \mathrm{rw} \end{gathered} .$ | 30Nru] | $\frac{. c 9 n j}{}$ | $\left\lvert\, \begin{aligned} & \text { 8uluw } \\ & \text { ivavd } \end{aligned}\right.$ | $\begin{aligned} & 10 \text { INJW3OVId } \\ & \text { ONV } 378 W \pi N \end{aligned}$ |  |  | 1380) |



Fiz. 21 a Relationship between pullout and 7-day compressive streng:h of $4 \times 8$-in. (102 $\times 203-\mathrm{mm}) \mathrm{cy!}$ inders


Fig. $2 \cdot 1 \subseteq$ Relationship between pullout and 91 -day compressive strength of $4 \times 8$-in. ( $102 \times 203-\mathrm{mm}$ ) cylinders


Fis. 1.2 b . Relationship between pullout and compressive strength of $4 \times 8$-in. ( $102 \times 203-\mathrm{mm}$ ) corcs drilled after 28 days


Fig. $2 \cdot 16$ Relationship between pullout and 28 -day compressive sticagth of $4 x$-in. (102.x $203-\mathrm{mm}$ ) estincers


Fig. 2. 1 Relationst:ip between pullout and compressive strength of $4 \times 8$-in. ( $102 \times 203-\mathrm{mm}$ ) cores drilled after 7 days


Fig.2.2C. Relationship between pullout and compressive strength of $4 \times 8$-in. ( $102 \times 203-\mathrm{mm}$ ) cores drilled after 91 days

Ref.(2)


Fig. 2.3 Comparison of relationships obtained in this investigation with those obtained by others


Fig. 2.4 Relationship between pullout strength and rebound number of 28 days


Fig. 2-5 Relationship between pullout strength and pulse velocity at 28 days









후 후 $\overrightarrow{4}$ ~ ~~ $\stackrel{4}{4}$
 to i ì $\longrightarrow \longrightarrow$

0
020 mm MAXIMUM SIZE CRUSHED GRANITE


cuat shansin (MPD)

$$
\begin{aligned}
& \text { HION3USS } \\
& \begin{aligned}
\mathrm{SE} & =2.75 \mathrm{MPa} \\
\mathrm{n} & =45
\end{aligned} \\
& \text { 96.0=」 } \\
& \text { - } \\
& 1 \Delta \\
& \begin{array}{l}
11 \\
\dot{8} \\
\hline
\end{array} \\
& \text { 0.1. }=\mathrm{HION} \\
& 1+60 \\
& \text {-3כyod inolind } 971+60 \\
& \text { - }
\end{aligned}
$$


CUAE SHAENEIM (MPO)




Fig $Q^{\text {GThe machined pullout insert }}$ is mounted on the inside of the form prior to placing concrete

Fig. b The formwork cor part of the formivork) is removed


Fig. C The centre pull hydraulic jack with a $60-\mathrm{mm}$ internal diameter bearing ring is mounted on the surface of concrete

Fig. $d$ A force is gradually applied on the insert and a small piece of the concrete is dislodged. The force required to pullout the insert through the counter pressure device (bearing ring) is called the pullout force.

$$
\text { Fig. } 2.9 \quad \text { Ref. (4) }
$$



Fig.2-lod Pullout assembly with plywood form (exploded vien at bottom. The diameter of the threaded shaft is \% in. ( 19 mm )


Hole 1: Experfence Indieates that :ne atove dimensions are most
atallabla. asilatio.

Hote 2: Total area $A$ of convex su:faze of a frustum of a right circulat cone is cqual to, i.c.

$$
\begin{aligned}
& A-s\left(A_{1} R+d, 2\right) \\
& \text { Dhete } s-\sqrt{h^{3}+\left(d_{1} / 2-d, i 2\right)^{\prime}} \\
& \text { substituting tor } s, d_{1} \text { and } d_{2} \text {, we zet: } \\
& A-28.40 \mathrm{in} .^{\prime}\left(1 \mathrm{~s} 1.5 \mathrm{~cm}^{\prime}\right)
\end{aligned}
$$

Fig. 2. lobSketch showing pusition and dimensions of the bearing plate, threajed shaft, and the emberdded head
, Ref. (2)
Clquasse fnolind flog paradef




Fig. $2 \cdot 13$ Lok-test procedure for early stripping of formwork Ref.(7)


Fig. 2. 14 Capo-test procedure for testing hardened concrete Ref. (7)

## CHAPTER 3

## EXPERIMENTAL PROGRAM

### 3.1 General

An elaborate test program is designed to generate sufficient amount of test data which would serve as the basis of the development of the strength prediction models using Lok-Test and Capo-Test.

To examine the effect of various variable parameters, such as cement content, water-cement ratio and type of aggregate, so as to observe the influence of each of these variables on the strength.

### 3.2 Scope of investigation

> In this study, the water-cement ratio is varied from .45 to .70 and corresponding cement content varied from 300 to $400 \mathrm{~kg} / \mathrm{m}^{3}$. for each mix, two concrete panels of $750 * 500 * 150 \mathrm{~mm}$ and twenty one $75 * 150 \mathrm{~mm}$ cylinders are cast. These cylinders are tested in direct compression for evallation of $3,7,14,28$ and 91 days compressive strength. The Lok-Test on the
concrete panels are made at $3,7,14$ and 28 days. Also, the panels are subjected to Capo-Tests at 14,28 and 91 days. In addition, 75 * 150 mm cores were drilled from the panels at 7,14,28 and 91 days,

Tables 3.1 and 3.2 show the gradation of coarse and fine aggregates used in mixes, Fig. 3.1 shows the experimental program procedure. The water content was adjusted according to the moisture content and the absorption capacity of the aggregates.

### 3.3 Materials and molds:

Two types of aggregates were used in this study, the first one is crushed limestone from Jabel Dhahran area and the other is from Abu-Hadriyah, which are commonly used in The Eastern Province.

The aggregate used were unwashed and its water absorption had been taken in consideration during the design of mixes. For mixes having low water cement ratios, superplasticizers were used to get the desired workability. The nominal maximum size of coarse aggregate used was limited to $20 \mathrm{~mm}(3 / 4 ")$.

The fine aggregate used was Abqiq-Road sand, the cement was Type V. Portable tap water was used in
mixing and curing of all concrete specimens.
Two types of molds were used in this experimental study, wooden molds for repeatitive use with inside dimensions
of 1500 * 750 * 150 mm to get two slab panels of 750 * 500 * 150 mm , and plastic molds for standard cylinders. For each wooden mold 14 inserts of Lok-Test had been fised before casting as shown in Plate 3.1. The concrete cylinders were tested for compressive strength, and the panels were used to perform Lok and Capo tests and cores strength.

### 3.4 Casting and curing of specimens:

By using concrete mixer the coarse and fine aggregates and cement were mixed dry , measured amounts of sweet water was added and the constituents were mixed together.

The molds were cast by filling the forms progressively from one end, the compacting was done by using an electrical internal vibrator. For each mix the 21 (75 * 150 mm ) cylinders were cast by filling the plastic molds in approximately three equal layers and compacting on a vibrating table. After casting all the
the molded specimens were covered with plastic sheets or burlaps, left in the casting place for 24 to 48 hours and then demolded and transferred to the curing and testing place. All the specimens were moist cured for 7 days followed by curing in air.

### 3.5 Test Procedure:

### 3.5.1 Compressive Strength Test:

Compressive strength was determined by testing 75 * 150 mm standard cylinders on a compression testing machine. The test method simply consisted of applying compressive axial load to cylinders until failure occured. The compressive strength of the specimen is calculated by dividing the maximum load attained by the cross-sectional area of the specimen. All the tested cylinders were first capped with sulphur before testing.

### 3.5.2 Core samples:

For the purpose of comparison of the cylinder strength versus the in-situ strength of the panels of identical mix design, cores taken from the panels by using coring machine Plate 3.2 , and the water was supplied continuously during the coring process. Concrete panels were drilled vertically through the thickness of the panels. Each core was of $75 * 150 \mathrm{~mm}$ dimensions, the cores were capped and tested.

### 3.5.3 Lok-Test:

Erom each mix, two concrete panels were cast on which 14 lok inserts were fixed. Each panel has 7 inserts distributed at equal distances in the middle of thickness on two sides as shown in Plate 3.3. At the age of testing $3,7,14$, and 28 days three lok tests have been performed, as the following procedure :
(1) The Lok-Test inserts are placed in the form before casting of concrete see Plate 3.4 . The distance between disc and form surface is 25 mm .
(2) After one or two days of casting, the screw removed and the form demolded.
(3) At the time of testing, using the stem handle turn the stem out of the concrete and remove it from the stem handle with a plier as shown in Plate 3.5 .
(4) A special pullbolt is pushed through the coupling and the centering plate, where the coupling curved inner surface should face the curved surface of the pullbolt. Using the bolt handle, turn the pullbolt in anticlockwise direction, untill the disc in the concrete is completely threaded on as shown in Plate 3.6. If the coupling is free to rotate, back off the pullbolt $1 / 2$
rotation, Plate 3.7 shows parts of the assembly.
(5) The handle of the Lok -test instrument should be turned anti-clockwise untill fully extended. The instrument attached to the coupling by turning the coupling and sliding the heads of the three bolts, Plate 3.8, through the wide sections of the elongated holes in the coupling. The instrument put against the surface and twist the coupling anti-clockwise by inserting finger and thumb through the portholes in the instrument front part, to lock it on to the instrument bolt head, Plate 3.9 illustrates this step.
(6) The handle of the telescope was turned clockwise, so the loading will take place. At the moment of failure of concrete the pointer of the guage will stop moving and fall back, and the pulling force was recorded. Plate 3.10 shows the hydraulic pulling machine. however, excessive twisting may cause leakage of oil, to avoid that it is recommended to turn the handle slowly.
(7) Remove the instrument from the coupling by turning the coupling clockwise, then remove the pullbolt assembly by turning the pullbolt clockwise with bolt handle. in this case, the surface of the concrete will be left without any damage as shown in Piate 3.11. If the load
continued untill failure, there will be a hole in the concrete measuring 25 mm in depth and 55 mm in diameter see Plate 3.12. The remaining part of the structure will be undamaged.

### 3.5.4 Capo-Test:

Capo tests conducted three times at age 14, 28, and 91 days on the two remaining sides of the concrete panels, Plate 3.13 shows the tools of this test. The procedure of test is as the following :
(1) An area of $100 \mathrm{~mm} * 100 \mathrm{~mm}$ of the concrete surface was cleaned and made plane and smooth by using a heavy grinder.
(2) The top part of the rubber coupling was connected to the drill machine and tighten. One of the plastic hoses was attached to the drill housing nipple closest to the drill machine to supply water about 2 liters is required per test. Attaching a second hose to the bottom nipple to eliminate dirty waste water.
(3) A hole of 18 mm in diameter and 45 mm in depth perpendicular to the concrete surface was prepared using the drill machine, the core should be broken and removed by using the tweezers as shown in Plate 3.14 .
(4) Using the milling cutter unit with its diamond miller make a groove into the hole with 25 mm diameter, positioned 25 mm from the concrete surface and 10 mm in depth as shown in Plate 3.15 and 3.16.
(5) The assembly expansion unit is shown in Plate 3.17, the Capo-insert is placed on the pullbar with cone. The press part was placed on the pullbar and thread the pullbar into the base pullbolt fully and thread the nut on the base pullbolt.
(6) The expansion unit inserted into the hole. If needed, push the tool in position by placing a wooden block on the end of the base pullbolt. Otherwise, enlarge the hole diameter by using the diamond driil. The press plate must be flush with the concrete sirface with no space in between.
(7) The insert should be expanded to fill the groove as shown in Plate 3.18 . The nut was turned with the large 45 mm key in a clockwise direction whils holding the base pullbolt steady with the adjustable key. The Capo insert is expanded as the pullbar with cone is forced into it. The expansion of the insert is somplete when the thread on the base pullbolt appears on the upper surface of the nut.
(8) The counterpressure ring was put over the expansion unit where the flat face towards the concrete and fix the coupling on the base pullbolt. connect this assembly to the Lok-Test instrument and turn the handle slowly untill the failure cone is taken out of concret as shown in Plate 3.19.
(9) After the failure cone extracted Plate 3.20, turn the coupling clockwise and lift the expansion unit with the counterpressure ring away from the instrument. Remove the coupling and counterpressure from the assembly, release Capo cone and the insert if not broken.

Table 3.1: Gradation of Coarse Aggregate

| Sieve no. | \% Passing | \% Ret. <br> $3 / 4^{\prime \prime}$ <br> $3 / 8^{\prime \prime}$ |
| :--- | :--- | :--- |
| $3 / 16^{\prime \prime}$ | 90 | 0.0 |
|  | 0.0 | 10.0 |
| 80.0 |  |  |
| 100.0 |  |  |

$C A / E A=1.63$
Max. aggregate size= $3 / 4$ "

Type of test
LOK-TEST CAPO-TEST CORES CYLINDERS

Age of test


W/C ratios

## Cement contents

## 300

400

Type of aggregate


Eig. 3.1 chart of the experimental program

| SEVE AHALYSIS |  |  |  |  |  |  |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $5$ |  | \|6TE: -it.or sexa |  |  | chase indes io |  |
|  |  | SANO $181$ | (1) | $\left\|\begin{array}{c} \operatorname{CTHA} \\ x \end{array}\right\|$ | RET 5 : | P25s |
| Vs |  |  |  |  |  |  |
| 4 |  |  |  |  |  |  |
| 8 |  |  |  |  |  | 1.5.0n |
| 16 | -16.6 | -14.2 | 0.3 | 0.03 | 0.03 | 59.5: |
| 30 | -03.3 | :57.5 | 54.2 | S.t2 | 5.55 | 9\%.js |
| 50 | 303.7 | 115.: | 535.5 | $5 \mathrm{5i} 55$ | 59.0 | 62.0 |
| 108 | 353.: | 123.2 | $26: 9$ | 26.iy | ES.ij | 16.: |
| 20.5 | 295.1 | :32.0 | 131.9 | 13.79 | 97. 51 | 0.6: |
| P乐品 | 250.2 | 234.8 | 3.00 | 0.32 | 99.50 | 1.6 |
| TOT. |  |  | 999.6 |  |  |  |
| HT. Of SResinc: $1000.0 \mathrm{R}=3$ |  |  |  |  |  |  |

Table 3.2 The gradation of fine aggregate


Eig. 3.2 The gradation of fine aggregate


Plate 3.1 Wooden mold for casting panels.


Plate 3.2 Coring machine.


Plate 3.3 Lok inserts are fixed before casting.


Plate 3.4 Position of Lok inserts on pancl.


Plate 3.5 Stem handle turning stem out of the concrete.


Plate 3.6 Bolt handle used to thread pullbolt to disc.


Plate 3.7 Parts of the assembly of Lok test.


Plate 3.8 The pulling heads of the Lok test instrument.


Plate 3.9 Lok test instrument locking to the coupling.


Plate 3.10 Lok test instrument.


Plate 3.11 Concrete surface after a completed Lok-test.


Plate 3.12 The concrete surface after the failure.


Plate 3.13 Tools used for Capo-test.


Plate 3.14a Drill-machine during the operation.


Plate 3.14 b Removing the core by using the tweczers.



Plate 3.16 Technique used to make a groove in concrete.


Plate 3.17 The expansion unit assembly.


Plate 3.18 Capo insert is expanded to fill the groove.


Plate 3.19 The expansion unit before attaching
to the Lok-test instrument.


Plate 3.20 The failure cone of Capo-test.

## CHAPTER 4

 RESULTS AND DISCUSSION
### 4.1 General:

In this chapter laboratory generated data for Lok-test, Capo-test, cores and compressive strength of cylinders are presented. Based on these data and the parameter of the study, calibration curves for different concrete will be developed using statistical methors.

### 4.2 Relationship of lok strength and age:

Data for lok strength(L) at different ages generated from the tests on the specimens are shown collectively in Table 4.1a to 4.1 h , for Jabel Dhahran' aggregate, and in Table 4.2a to 4.2 h , for Abu-Hadriyah aggregate. By using Jabel Dhahran the value of L ranged from about 8.0 kN to 35.0 kN . Also by using Abu-Hadriyah, the value of $L$ ranged from about 14.0 kN to 35.0 kN .

In order to determine the suitable equations, various forms of equations were attempted in regression analysis. The regression analysis was performed using the statistical package SAS . After a number of attempts the following
forms of equations were showed better fitting between lok strength and age of concrete in days;

$$
\begin{align*}
& L(\text { lok strength })=a_{0}+a_{1} D+a_{2} D^{2}  \tag{4.1a}\\
& L(\text { lok strength })=a_{0}+a_{1} D \tag{4.1b}
\end{align*}
$$

The two equations tested, the polynomial type gave relatively better fit with the data for both types of aggregates, and is an acceptable equation for prediction of strength within the range of compressive strength considered in this study since it has better statistical parameters than the linear as shown in Tables 4.3 and 4.4. Using SAS program the values of aO, al, a2, coefficient of multiple determination $R^{2}$, root of mean square error $\sqrt{\overline{M S} \bar{E}}$ and coefficient of variation (C.V) were determined for each type. Erom Table 4.3, the coefficient of variation for polynomial type ranged from $7.77 \%$ to $12.08 \%$ and the coefficient of multiple determination ranged from 0.68 to 0.87, whereas the coefficient of variation for linear type ranged from $9.18 \%$ to $15.02 \%$ and the coefficient of multiple determination ranged from 0.56 to 0.77: In Table 4.4, the coefficient of variation for polynomial type ranged from $4.62 \%$ to $9.39 \%$ and the coefficient of multiple determination
ranged from 0.77 to 0.95 , whereas the coefficient of variation for linear type ranged from $6.12 \%$ to $10.91 \%$ and the coefficient of multiple determination ranged from 0.68 to 0.89 .

Table 4.3 shows the values of regression coefficients a0,al and a2 within the equations, $R^{2},(C . V)$ and $\sqrt{ } \bar{M} \bar{S} \bar{E}$ for Eqn.(4.1) and the equations by using Jabel Dhahran aggregate and Table 4.4 shows the same statistical parameters for Abu-Hadriyah. Figs. 4.1a, 4.1b and 4.2a, 4.2b show the graphical representations of the equations, it is clear that lok strength is increasing with increasing age.

### 4.3 Relationship of lok strength and water-cement ratio:

Laboratory generated data are shown in Table 4.5 for Jabel Dhahran, and Table 4.6 for Abu-Hadriyah. From regression analysis of possible equations which describe the relationship between Lok-strength and $W / C$ ratios, two equations were finally selected. The trial equations were of the following forms:

$$
\begin{align*}
& L=b_{0}+b_{1} W C+b_{2} W C^{2}  \tag{4.2a}\\
& L=b_{0}+b_{1} W C \tag{4.2b}
\end{align*}
$$

The regression coefficients b0 , b1 ,b2 ,coefficient of multiple determination, root of mean square error and coefficient of variation were determined for each equation. The results are shown in Table 4.7 and Table 4.8 .

Between the two equations tested the polynomial type gave relatively better fit with the data for both aggregates, and has better statistical parameters than the linear form. Where in Table 4.7, the coefficient of variation for polynomial type was from $6.40 \%$ to $16.0 \%$ and the coefficient of multiple determination ranged from 0.61 to 0.94 , whereas the coefficient of variation for linear type ranged from 8.54\% to $19.50 \%$ and the coefficient of multiple determination was from 0.36 to 0.91. From Table 4.8, the coefficient of variation for polynomial type ranged from $4.78 \%$ to $19.36 \%$ and the coefficient of multiple determination ranged from 0.40 to 0.90 , whereas the coefficient of variation for linear type ranged from 4.92\% to $18.49 \%$ and the coefficient of multiple determination ranged from 0.366 to 0.84. Fig. 4.3a, 4.3b and Fig. 4.4a, 4.4b show the graphical representation of these equations. It is clear that an inverse relationship exists between lok strength and W/C ratio.

### 4.4 Relationship of lok strength and cement content:

Many forms of equations were attempted in regression analysis. The linear form gave relatively better fit with the data collected for Jabel Dhahran aggregate in Table 4.9. This relationship is shown in Fig. 4.5 for different ages. The models and statistical parameters are shown in Table 4.10 .

### 4.5 Relationship of capo strength and age:

Data for Capo strength(C) at different ages generated from the tests on the specimens are shown collectively in Table 4.11a to 4.11f, for Jabel Dhahran aggregate, and in Table 4.12a to 4.12f, for Abu-Hadriyah aggregate. By using Jabel Dhahran' the value of $C$ ranged from about 13.0 kN to 34.0 kN . Also by using Abu-Hadriyah, the value of C ranged from about 17.0 kN to 36.0 kN .

Different forms of equations were attempted also in regression analysis for Capo-Tests. From trail runs the following forms of equations showed better fitting between capo strength and days;

$$
\begin{equation*}
C(\text { capo strength })=a_{0}+a_{1} D+a_{2} D^{2} \tag{4.3a}
\end{equation*}
$$

$$
\begin{equation*}
C(\text { capo strength })=a_{0}+a_{1} D \tag{4.3b}
\end{equation*}
$$

Between the two equations tested, the polynomial type gave relatively better fit with the data for both types of aggregates. Using SAS program the values of a0, a1, a2, coefficient of multiple determination $R^{2}$, root of mean square error $\sqrt{\bar{M} \bar{S} E}$ and coefficient of variation (C.V) were determined for each type.

Table 4.13 shows the values of regression coefficients $a 0, a 1$ and $a 2$ within the equation, $R^{2},(C . V)$ and $\sqrt{M S E}$ for Eqn.(4.3a) and the equations by using Jabel Dhahran' aggregate and Table 4.14 shows the same statistical parameters for Abu-Hadriyah. Where in Table 4.13, the coefficient of variation for polynomial type was from 6.98\% to $13.28 \%$ and the coefficient of multiple determination ranged from 0.18 to 0.71 , whereas the coefficient of variation for linear type ranged from 6.46\% to $12.39 \%$ and the coefficient of multiple determination was from 0.16 to 0.69. From Table 4.14, the coefficient of variation for polynomial type ranged from• 4.99\% to $11.34 \%$ and the coefficient of multiple determination ranged from 0.03 to 0.86 , whereas the coefficient of variation for linear type
ranged from 6.53\% to $11.22 \%$ and the coefficient of multiple determination ranged from 0.01 to 0.68. Eigs. 4.6a, 4.6b and $4.7 \mathrm{a}, 4.7 \mathrm{~b}$ show the graphical representations of the previous equations.

### 4.6 Relationship of capo strength and water-cement ratio:

Laboratory generated data are shown in Table 4.15 for Jabel Dhahran , and Table 4.16 for Abu-Hadriyah. The trial equations which describe the relationship between Capostrength and W/C ratios, were of the following forms:

$$
\begin{align*}
& c=b_{0}+b_{1} W_{C}+b_{2} W_{c}^{2}  \tag{4.4a}\\
& c=b_{0}+b_{1} W_{C} \tag{4.4b}
\end{align*}
$$

The regression coefficients b0 , b1 ,b2 ,coefficient of multiple determination, root of mean square error and coefficient of variation were determined for each equation. The results are shown in Table 4.17 and Table 4.18.

Between the two equations tested the polynomial type gave relatively better fit with the data for both aggregates, and has better statistical parameters than the linear form.

Where in Table 4.17, the coefficient of variation for polynomial type was from $8.84 \%$ to $11.98 \%$ and the coefficient of multiple determination ranged from 0.644 to 0.89 , whereas the coefficient of variation for linear type ranged from $8.24 \%$ to $11.83 \%$ and the coefficient of multiple determination was from 0.64 to 0.86 . From Table 4.18, the coefficient of variation for polynomial type ranged from $6.51 \%$ to $11.78 \%$ and the coefficient of multiple determination ranged from 0.34 to 0.91 , whereas the coefficient of variation for linear type ranged from $6.23 \%$ to $10.91 \%$ and the coefficient of multiple determination ranged from 0.33 to 0.90. Fig. 4.8a, 4.8b and Eig. 4.9a, 4.9 b show the graphical representation of the previous equations.

### 4.7 Relationship of compressive strength and age:

Data for compressive strength(Fc) at different ages generated from the test on the specimens are shown collectively in Table 4.1a to 4.1h, for Jabel Dhahran aggregate, and in Table 4.2 a to 4.2 h , for Abu-Hadriyah aggregate. By using Jabel Dhahran the value of FC ranged from about 8.29 MPa to 36.08 MPa . Also by using AbuHadriyah, the value of EC ranged from about 13.85 MPa to
37.94 MPa .

From trail runs the following forms of equations which showed better fitting between compressive strength and days;
$E_{C=} a_{0}+a_{1} D+a_{2} D^{2}$
$E_{C=}{ }^{a_{0}}+a_{1} D$

Between the two equations tested, the polynomial type gave relatively better fit with the data for both types of aggregates. Using SAS program the values of a0, al, a2, coefficient of multiple determination, root of mean square error and coefficient of variation were determined for each type.

Table 4.19 shows the values of regression coefficients $a 0, a 1$ and $a 2$ within the equation and the statistical parameters for Eqn.(4.5) and the equations by using Jabel Dhahran aggregate and Table 4.20 shows the same statistical parameters for Abu-Hadriyah. Where in Table 4.19, the coefficient of variation for polynomial type was from 3.60\% to $9.39 \%$ and the coefficient of multiple determination ranged from 0.89 to 0.98 , whereas the coefficient of variation for linear type ranged from $3.72 \%$ to $19.15 \%$ and
the coefficient of multiple determination was from 0.57 to 0.91. Erom Table 4.20, the coefficient of variation for polynomial type ranged from $4.92 \%$ to $9.12 \%$ and the coefficient of multiple determination ranged from 0.74 to 0.98, whereas the coefficient of variation for linear type ranged from $6.01 \%$ to $13.41 \%$ and the coefficient of multiple determination ranged from 0.62 to 0.91 . Figs. 4.10a, 4.10b and 4.11a, 4.11b show the graphical representations of these equations which indicate that the compressive strength is increasing with age increasing.

### 4.8 Relationship of compressive strength and water-cement Ratio:

Laboratory generated data are shown in Table 4.21 for Jabel Dhahran , and Table 4.22 for Abu-Hadriyah. Erom regression analysis of possible equations which describe the relationship between compressive strength and W/C ratios, two equations were finally selected. The trial equations were of the following forms:

$$
\begin{equation*}
\mathrm{E}_{\mathrm{c}}=\mathrm{b}_{0}+\mathrm{b}_{1} \mathrm{WC}+\mathrm{b}_{2} \mathrm{WC}^{2} \tag{4.6a}
\end{equation*}
$$

$E_{c}=b_{0}+b_{1} W C$

The regression coefficient s b0 , b1 ,b2 ,coefficient of multiple determination, root of mean square error (MSE) and coefficient of variation (C.V) and other statistical parameters were determined for each equation. The results are shown in Table 4.23 and Table 4.24.

The polynomial type of equations gave relatively better fit with the data for both aggregates, and has better statistical parameters than the linear form. Where in Table 4.23, the coefficient of variation for polynomial type was from $3.38 \%$ to $14.79 \%$ and the coefficient of multiple


#### Abstract

determination ranged from 0.73 to 0.98 , whereas the coefficient of variation for linear type ranged from 4.15\% to $19.80 \%$ and the coefficient of multiple determination was from 0.47 to 0.95. From Table 4.24, the coefficient of variation for polynomial type ranged from 4.63\% to 11.40\% and the coefficient of multiple determination ranged from 0.60 to 0.96 , whereas the coefficient of variation for linear type ranged from $4.83 \%$ to $14.72 \%$ and the coefficient of multiple determination ranged from 0.36 to 0.93 . Figs. 4.12 and 4.13 show the graphical presentation of these equations for Jabel Dhahran and Abu-Hadriyah.


### 4.9 Relationship of compressive strength and cement content:

Between the two equations tested to correlate compressive strength and cement content, The linear form gave relatively better fit with the data collected in Table 4.25a for Jabel Dhahran aggregate. This relationship is shown in Fig. 4.14 for different ages, and the statistical parameters are shown in Table 4.25b .

### 4.10 Relationship between lok and compressive strength:

Table 4.26a, 4.26b shows the data for Jabel Dhahran and

Table 4.27a, 4.27b for Abu-Hadriyah. In order to get a prediction model, a calibration equation has been developed using measurements of lok and compressive strength. For this purpose, an analytical predictive equation was developed. It has been shown that the behaviour of the compressive strength is similar to that of lok strength. Thus for a calibration equation the value of FC can be related to L by a linear equation. The calibration equation takes the form : $E_{C}=C_{0}+C_{1} L$

The calibration equations and statistical parameters are shown in table 4.28 for both types of aggregates. Fig.(4.15a-c) and fig.(4.16a-c) illustrate the representation of calibration equations for both types of aggregate.

### 4.11 Relationship between capo and compressive strength:

Data for compressive strength and capo strength are shown in Table 4.29a, 4.29b for Jabel Dhahran and Table 4.30a, .4.30b for Abu-Hadriyah. a model has been developed using measurements of Capo and compressive strength. Since the behaviour of the compressive strength is similar to that of
capo strength. Thus for a calibration equation the value of FC can be related to $C$ by a linear equation. The calibration equation takes the form :
$E_{C}=D_{0}+D_{1} C$

The calibration equations and statistical parameters are shown in Table 4.31 for both types of aggregates. Fig. 4.17a to 4.17c and Eig. 4.18a to 4.18c illustrate the representation of calibration equations for both types of aggregate.

### 4.12 Combined Models:

From Table 4.28 which show the relationship between compressive strength of cylinders and lok strength by using different $W / C$ ratios and cement contents, where the calibration equation for Jabel Dhahran is:

$$
\begin{equation*}
E_{C}=-2.60+1.21 P_{L} \tag{4.9}
\end{equation*}
$$

The coefficient of variation as a function of compressive strength is $10.29 \%$, the coefficient of correlation is 0.95 . For Abu-Hadriyah the equation is:

$$
\begin{equation*}
\mathrm{F}_{\mathrm{C}}=-2.266+1.23 \mathrm{P}_{\mathrm{L}} \tag{4.10}
\end{equation*}
$$

With coefficient of variation equals to $6.98 \%$ and 0.96 as a coefficient of correlation. The combined calibration equation developed by using both types of aggregates is:

$$
\begin{equation*}
\mathrm{E}_{\mathrm{C}}=-2.95+1.24 \mathrm{P}_{\mathrm{L}} \tag{4.11}
\end{equation*}
$$

The coefficient of variation of Eqn. (4.11) is $8.68 \%$, the coefficient of correlation is 0.96 .

[^0]contents, where the calibration equation for Jabel Dhahran is:
$F_{C}=1.18+1.17 P_{C}$

The coefficient of variation as a function of compressive strength is $8.82 \%$, the coefficient of correlation is 0.94 . Eor Abu-Hadriyah the equation is:
$\mathrm{E}_{\mathrm{C}}=2.97+1.09 \mathrm{P}_{\mathrm{C}}$

With coefficient of variation equals to $5.0 \%$ and 0.93 as a coefficient of correlation. The combined calibration equation developed by using both types of aggregates is:
$E_{C}=1.53+1.15 P_{C}$

The coefficient of variation of Eqn. (4.14) is $6.82 \%$ and the coefficient of correlation is 0.95 . Fig. 4.19a and 4.19b show the combined models for Lok and Capo, where $P$ measured in kN and Fc in MPa.

Table 4.1a: Experimental data for Jabel Dhahran aggregate concrete at 3 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | LOK (kN) |
| :--- | :--- | :--- |
| .70 | 11.90 | 10 |
| .70 | 9.76 | 9 |
| .70 | 9.22 | 8 |
| .65 | 9.07 | 13 |
| .65 | 8.69 | 12 |
| .65 | 8.29 | 12 |
| .55 | 12.19 | 16 |
| .55 | 11.71 | 15 |
| .55 | 11.24 | 14 |
| .45 | 15.93 | 16 |
| .45 | 13.59 | 13 |
| .45 | 12.84 | 12 |

Table 4.1b: Experimental data for Jabel Dhahran aggregate concrete at 7 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | LOK (kN) |
| :--- | :--- | :--- |
| .70 | 12.89 | 13 |
| .70 | 12.04 | 11 |
| .70 | 12.04 | 10 |
| .65 | 12.77 | 17 |
| .65 | 12.68 | 16 |
| .65 | 12.19 | 13 |
| .55 | 22.43 | 20 |
| .55 | 21.94 | 19 |
| .55 | 21.06 | 17 |
| .45 | 19.20 | 22 |
| .45 | 17.50 | 15 |
| .45 | 15.85 | 14 |

Table 4.1c: Experimental data for Jabel Dhahran aggregate concrete at 14 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | LOK (kN) |
| :--- | :--- | :--- |
| .70 | 16.20 | 17 |
| .70 | 15.54 | 15 |
| .70 | 15.32 | 13 |
| .65 | 16.58 | 17 |
| .65 | 15.89 | 17 |
| .65 | 15.61 | 17 |
| .55 | 25.45 | 23 |
| .55 | 25.35 | 19 |
| .55 | 24.09 | 17 |
| .45 | 25.91 | 25 |
| .45 | 23.52 | 25 |
| .45 | 22.90 | 23 |

Table 4.1d: Experimental data for Jabel Dhahran aggregate concrete at 28 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | LOK (kN) |
| :--- | :--- | :--- |
| .70 | 19.85 | 19 |
| .70 | 18.95 | 17 |
| .70 | 17.63 | 16 |
| .65 | 20.09 | 21 |
| .65 | 19.02 | 18 |
| .65 | 18.53 | 17 |
| .55 | 26.82 | 23 |
| .55 | 25.35 | 22 |
| .55 | 24.58 | 21 |
| .45 | 29.35 | 28 |
| .45 | 28.30 | 28 |
| .45 | 27.85 | 26 |

Table 4.le: Experimental data for Jabel Dhahran aggregate concrete at 3 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | LOK ( KN ) |
| :--- | :--- | :--- |
| .70 | 10.54 | 15 |
| .70 | 8.97 | 13 |
| .70 | 8.78 | 12 |
| .65 | 15.51 | 16 |
| .65 | 15.41 | 15 |
| .65 | 14.34 | 11 |
| .55 | 20.10 | 17 |
| .55 | 19.51 | 17 |
| .55 | 17.07 | 16 |
| .45 | 26.82 | 24 |
| .45 | 26.33 | 24 |
| .45 | 25.84 | 23 |

Table 4.1f: Experimental data for Jabel Dhahran aggregate concrete at 7 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | LOK (kN) |
| :--- | :--- | :--- |
| .70 | 15.31 | 16 |
| .70 | 13.66 | 15 |
| .70 | 13.66 | 14 |
| .65 | 20.48 | 17 |
| .65 | 18.33 | 16 |
| .65 | 17.56 | 16 |
| .55 | 20.48 | 20 |
| .55 | 20.00 | 19 |
| .55 | 19.11 | 17 |
| .45 | 29.74 | 28 |
| .45 | 27.89 | 25 |
| .45 | 27.21 | 25 |

Table 4.1g: Experimental data for Jabel Dhahran aggregate concrete at 14 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | LOK (kN) |
| :--- | :--- | :--- |
| .70 | 18.42 | 16 |
| .70 | 16.66 | 16 |
| .70 | 14.91 | 15 |
| .65 | 20.97 | 22 |
| .65 | 20.67 | 18 |
| .65 | 19.31 | 17 |
| .55 | 29.54 | 25 |
| .55 | 29.07 | 24 |
| .55 | 25.84 | 21 |
| .45 | 32.67 | 32 |
| .45 | 30.62 | 31 |
| 45 | 30.23 | 28 |

Table 4.1h: Experimental data for Jabel Dhahran aggregate concrete at 28 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | LOK (kN) |
| :--- | :--- | :--- |
| .70 | 20.39 | 18 |
| .70 | 19.73 | 17 |
| .70 | 19.30 | 15 |
| .65 | 25.35 | 21 |
| .65 | 24.18 | 20 |
| .65 | 22.92 | 19 |
| .55 | 30.72 | 27 |
| .55 | 30.72 | 25 |
| .55 | 29.74 | 23 |
| .45 | 36.08 | 35 |
| .45 | 35.59 | 30 |
| .45 | 33.65 | 28 |

Table 4.2a: Experimental data for Abu-Hadriyah aggregate concrete at 3 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| $W / C$ | FC (MPa) | LOK (kN) |
| :---: | :---: | :---: |
| .65 | 16.29 | 17 |
| .65 | 14.53 | 17 |
| .65 | 13.85 | 14 |
| .55 | 17.75 | 19 |
| .55 | 17.26 | 18 |
| .55 | 16.09 | 16 |
| .45 | 25.35 | 23 |
| .45 | 24.48 | 20 |
| .45 | 23.40 | 17 |

Table 4.2b: Experimental data for Abu-Hadriyah aggregate concrete at 7 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| $W / C$ | $E C$ (MPa) | LOK (kN) |
| :--- | :--- | :--- |
| .65 | 21.36 | 19 |
| .65 | 19.31 | 17 |
| .65 | 18.73 | 16 |
| .55 | 25.35 | 19 |
| .55 | 23.89 | 19 |
| .55 | 23.50 | 18 |
| .45 | 30.23 | 28 |
| .45 | 28.38 | 26 |
| .45 | 27.50 | 26 |

Table 4.2c: Experimental data for Abu-Hadriyah aggregate concrete at 14 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| $W / C$ | $E C(M P a)$ | LOK (kN) |
| :--- | :--- | :--- |
| .65 | 25.16 | 22 |
| .65 | 24.09 | 21 |
| .65 | 22.82 | 19 |
| .55 | 29.07 | 26 |
| .55 | 28.31 | 24 |
| .55 | 28.04 | 21 |
| .45 | 36.08 | 31 |
| .45 | 33.74 | 27 |
| .45 | 25.78 | 26 |

Table 4.2d: Experimental data for Abu-Hadriyah aggregate concrete at 28 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W,C | EC (NPa) | LOK (kN) |
| :---: | :---: | :---: |
| .65 | 26.53 | 25 |
| .65 | 26.33 | 23 |
| .65 | 24.96 | 22 |
| .55 | 30.72 | 29 |
| .55 | 29.25 | 25 |
| .55 | 26.53 | 24 |
| .45 | 36.28 | 32 |
| .45 | 35.40 | 32 |
| .45 | 34.62 | 31 |

Table 4.2e: Experimental data for Abu-Hadriyah aggregate concrete at 3 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | LOK (kN) |
| :---: | :---: | :---: |
| .65 | 17.05 | 16 |
| .65 | 14.59 | 15 |
| .65 | 13.97 | 14 |
| .55 | 16.58 | 18 |
| .55 | 16.58 | 17 |
| .55 | 15.21 | 15 |
| .45 | 24.38 | 22 |
| .45 | 23.60 | 21 |
| .45 | 21.74 | 21 |

Table 4.2f: Experimental data for Abu-Hadriyah aggregate concrete at 7 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | LOK (kN) |
| :--- | :--- | :--- |
| .65 | 23.40 | 21 |
| .65 | 22.82 | 18 |
| .65 | 21.26 | 18 |
| .55 | 23.40 | 23 |
| .55 | 21.46 | 20 |
| .55 | 20.48 | 19 |
| .45 | 29.45 | 24 |
| .45 | 28.48 | 24 |
| .45 | 27.80 | 23 |

Table 4.2g: Experimental data for Abu-Hadriyah aggregate concrete at 14 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | LOK (kN) |
| :---: | :---: | :---: |
| .65 | 26.33 | 26 |
| .65 | 25.65 | 23 |
| .65 | 24.87 | 20 |
| .55 | 30.95 | 25 |
| .55 | 30.23 | 23 |
| .55 | 28.24 | 22 |
| .45 | 34.70 | 30 |
| .45 | 33.58 | 29 |
| .45 | 28.87 | 28 |

Table 4.2h: Experimental data for Abu-Hadriyah aggregate concrete at 28 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | LOK (kN) |
| :---: | :---: | :---: |
| .65 | 31.20 | 26 |
| .65 | 30.72 | 26 |
| .65 | 28.97 | 25 |
| .55 | 35.83 | 29 |
| .55 | 33.29 | 28 |
| .55 | 32.85 | 27 |
| .45 | 37.94 | 35 |
| .45 | 36.86 | 32 |
| .45 | 35.45 | 31 |

Table 4.3: Relationships between lok strength and age for Jabel Dhahran aggregate and statistical parameters.

| W/C | $C C$ | Model | $\sqrt{M S E}$ | $C . V$ | $R^{2}$ |
| :--- | :--- | :--- | :--- | :--- | :--- |
| .45 | 400 | $P=20.705+.971 D-.0215 D^{2}$ | 2.17 | 7.81 | 0.72 |
| .45 | 400 | $P=24.063+0.2836 D$ | 2.548 | 9.18 | 0.574 |
| .55 | 400 | $P=13.75+0.918 D-0.018 D^{2}$ | 1.625 | 7.77 | 0.85 |
| .55 | 400 | $P=16.62+.331 D$ | 2.01 | 9.59 | 0.75 |
| .65 | 400 | $P=12.017+0.717 D-0.015 D^{2}$ | 1.85 | 10.65 | 0.68 |
| 65 | 400 | $P=14.424+.2238 D$ | 2.057 | 11.86 | 0.56 |
| .45 | 300 | $P=9.09+1.455 D-.0286 D^{2}$ | 2.487 | 12.08 | 0.87 |
| .45 | 300 | $P=13.56+.541 D$ | 3.092 | 15.02 | 0.77 |
| .55 | 300 | $P=13.776+.633 D-.012 D^{2}$ | 1.905 | 10.11 | 0.69 |
| .55 | 300 | $P=15.685+.242 D$ | 2.0 | 10.62 | 0.61 |
| .65 | 300 | $P=10.82+.651 D-.0133 D^{2}$ | 1.48 | 9.355 | 0.76 |
| 65 | 300 | $P=12.90+.226 D$ | 1.685 | 10.64 | 0.66 |

Table 4.4: Relationships between lok strength and age for Abu-Hadriyah aggregate and statistical parameters.

| W/C | CC | Model | $\sqrt{\text { MSE }}$ | C.V | $\mathrm{R}^{2}$ |
| :---: | :---: | :---: | :---: | :---: | :---: |
| .45 <br> .45 | $400$ | $\begin{aligned} & P=18.24+.974 D-.0163 D^{2} \\ & P=20.79+0.452 D \end{aligned}$ | $\begin{aligned} & 1.233 \\ & 1.63 \end{aligned}$ | $\begin{aligned} & 4.62 \\ & 6.12 \end{aligned}$ | $\begin{aligned} & 0.945 \\ & 0.89 \end{aligned}$ |
| . 55 | $\begin{aligned} & 400 \\ & 400 \end{aligned}$ | $\begin{aligned} & P=14.75+0.817 D-0.0124 D^{2} \\ & P=16.68+.422 D \end{aligned}$ | $\begin{aligned} & 1.60 \\ & 1.747 \end{aligned}$ | $\begin{aligned} & 7.22 \\ & 7.88 \end{aligned}$ | $\begin{aligned} & 0.90 \\ & 0.86 \end{aligned}$ |
| . 65 | $\begin{aligned} & 400 \\ & 400 \end{aligned}$ | $\begin{aligned} & P=12.056+1.10 D-0.022 D^{2} \\ & P=15.50+.398 D \end{aligned}$ | $\begin{aligned} & 1.736 \\ & 2.25 \end{aligned}$ | $\begin{aligned} & 8.40 \\ & 10.91 \end{aligned}$ | $\begin{aligned} & 0.88 \\ & 0.77 \end{aligned}$ |
| .45 .45 | $300$ | $\begin{aligned} & \mathrm{P}=17.96+1.109 \mathrm{D}-.0223 \mathrm{D}^{2} \\ & \mathrm{P}=21.45+.395 \mathrm{D} \end{aligned}$ | $\begin{aligned} & 2.47 \\ & 2.82 \end{aligned}$ | $\begin{aligned} & 9.31 \\ & 10.60 \end{aligned}$ | $\begin{aligned} & 0.78 \\ & 0.68 \end{aligned}$ |
| .55 .55 | 3300 | $\begin{aligned} & P=15.783+.66 \mathrm{D}-.011 \mathrm{D}^{2} \\ & \mathrm{P}=17.42+.327 \mathrm{D} \end{aligned}$ | $\begin{aligned} & 2.035 \\ & 2.06 \end{aligned}$ | $\begin{aligned} & 9.39 \\ & 9.53 \end{aligned}$ | $\begin{aligned} & 0.77 \\ & 0.73 \end{aligned}$ |
| .65 .65 | 3300 | $\begin{aligned} & P=14.16+.57 D-.0086 D^{2} \\ & P=15.50+.295 D \end{aligned}$ | $\begin{aligned} & 1.52 \\ & 1.56 \end{aligned}$ | $\begin{aligned} & 7.85 \\ & 8.07 \end{aligned}$ | $\begin{aligned} & 0.83 \\ & 0.80 \end{aligned}$ |

Table 4.5: Experimental Lok strength (in kN) at different ages (in days) for Jabel Dhahran aggregate.

| W/C | CC | 3 days | 7 days | 14 days | 28 days |
| :--- | :--- | :--- | :--- | :--- | :--- | :--- |
| .70 | 300 | 9.00 | 11.33 | 15.00 | 17.33 |
| .65 | 300 | 12.33 | 15.33 | 17.00 | 18.67 |
| .55 | 300 | 15.00 | 18.67 | 19.67 | 22.00 |
| .45 | 300 | 13.67 | 17.00 | 24.33 | 27.33 |
| .70 | 400 | 13.33 | 15.00 | 15.67 | 16.67 |
| .65 | 400 | 14.00 | 16.33 | 19.00 | 20.00 |
| .55 | 400 | 16.67 | 18.67 | 23.33 | 25.00 |
| .45 | 400 | 23.67 | 26.00 | 30.33 | 31.00 |

Table 4.6: Experimental Lok strength (in kN) at different ages (in days) for Abu-Hadriyah aggregate.

| W/C | CC | days | 7 days | 14 days | 28 days |
| :--- | :--- | :--- | :--- | ---: | ---: |
| .65 | 300 | 16.00 | 17.33 | 20.67 | 23.33 |
| .55 | 300 | 17.67 | 18.67 | 23.67 | 26.00 |
| .45 | 300 | 20.00 | 26.67 | 28.00 | 31.67 |
| .65 | 400 | 15.00 | 19.00 | 23.00 | 25.67 |
| .55 | 400 | 16.67 | 20.67 | 23.33 | 28.00 |
| .45 | 400 | 21.33 | 23.67 | 29.00 | 32.67 |

102
Table 4.7: Relationships between Lok strength and WIC for Jabel Dhahran aggregate and statistical parameters.

| DAY | CC | Model | $\sqrt{\text { MSE }}$ | C.V | $\mathrm{R}^{2}$ |
| :---: | :---: | :---: | :---: | :---: | :---: |
| $\begin{array}{l\|l} 28 \\ 28 \end{array}$ | $400$ | $\begin{aligned} & P=57.46-60.7 w c+3.85 w^{2} \\ & P=56.23-56.27 w c \end{aligned}$ | $\begin{aligned} & 2.144 \\ & 2.034 \end{aligned}$ | $\begin{aligned} & 9.255 \\ & 8.78 \end{aligned}$ | $\begin{aligned} & 0.894 \\ & 0.894 \end{aligned}$ |
| $\begin{aligned} & 14 \\ & 14 \end{aligned}$ | $\begin{aligned} & 400 \\ & 400 \end{aligned}$ | $\begin{aligned} & P=71.68-114.9 w c+50.59 w^{2} \\ & P=55.47-56.84 w c \end{aligned}$ | $\begin{aligned} & 1.95 \\ & 1.886 \end{aligned}$ | $\begin{aligned} & 8.836 \\ & 8.54 \end{aligned}$ | $\begin{aligned} & 0.91 \\ & 0.91 \end{aligned}$ |
| 7 7 | $\begin{aligned} & 400 \\ & 400 \end{aligned}$ | $\begin{aligned} & P=102.6-253.6 w c+184.8 w c^{2} \\ & P=43.45-41.47 w c \end{aligned}$ | $\begin{aligned} & 1.22 \\ & 1.75 \end{aligned}$ | $\begin{aligned} & 6.40 \\ & 9.18 \end{aligned}$ | $\begin{aligned} & 0.94 \\ & 0.86 \end{aligned}$ |
| 3 | $\begin{aligned} & 400 \\ & 400 \end{aligned}$ | $\begin{aligned} & P=98.6-247.56 w c+180.1 w c^{2} \\ & P=40.88-40.79 w c \end{aligned}$ | $\begin{aligned} & 1.507 \\ & 1.92 \end{aligned}$ | $\begin{aligned} & 8.91 \\ & 11.35 \end{aligned}$ | $\begin{aligned} & 0.91 \\ & 0.83 \end{aligned}$ |
| $\begin{array}{\|l} 28 \\ 28 \end{array}$ | $300$ | $\begin{aligned} & \mathrm{P}=71.63-136.3 \mathrm{wc}+84.09 \mathrm{wc}^{2} \\ & \mathrm{P}=44.70-39.77 \mathrm{wc} \end{aligned}$ | $\begin{aligned} & 1.417 \\ & 1.47 \end{aligned}$ | $\begin{aligned} & 6.644 \\ & 6.90 \end{aligned}$ | $\begin{aligned} & 0.908 \\ & 0.89 \end{aligned}$ |
| 14 14 | $3 \begin{aligned} & 300 \\ & 300 \end{aligned}$ | $\begin{aligned} & P=54.94-88.9 w c+45.9 w c^{2} \\ & p=40.24-36.16 w c \end{aligned}$ | $\begin{aligned} & 1.835 \\ & 1.77 \end{aligned}$ | $\begin{aligned} & 9.66 \\ & 9.32 \end{aligned}$ | $\begin{aligned} & 0.83 \\ & 0.822 \end{aligned}$ |
| 7 | $3 \begin{aligned} & 300 \\ & 300 \end{aligned}$ | $\begin{aligned} P & =57.3+285.4 w c-267.5 w^{2} \\ P & =28.40-21.81 w c \end{aligned}$ | $\begin{aligned} & 2.497 \\ & 3.04 \end{aligned}$ | $\begin{aligned} & 16.03 \\ & 19.50 \end{aligned}$ | $\begin{aligned} & 0.613 \\ & 0.36 \end{aligned}$ |
| 3 3 | 3300 | $\begin{aligned} & P=-47.2+233.7 w c-219.1 w c^{2} \\ & P=23.00-17.85 w c \end{aligned}$ | $\begin{aligned} & 1.222 \\ & 1.94 \end{aligned}$ | $\begin{aligned} & 9.78 \\ & 15.45 \end{aligned}$ | $\begin{aligned} & 0.815 \\ & 0.483 \end{aligned}$ |

Table 4.8: Relationships between lok strength and W/c for Abu-Hadriyya aggregate and statistical parameters.

| DAY | CC | Model | $\sqrt{\text { MSE }}$ | C.V | $\mathrm{R}^{2}$ |
| :---: | :---: | :---: | :---: | :---: | :---: |
| $\begin{aligned} & 28 \\ & 28 \end{aligned}$ | $400$ | $\begin{aligned} & p=82.54-163.33 w c+116.67 w c^{2} \\ & p=48.03-35.00 w c \end{aligned}$ | $\begin{aligned} & 1.374 \\ & 1.417 \end{aligned}$ | $\begin{aligned} & 4.776 \\ & 4.92 \end{aligned}$ | $\begin{aligned} & 0.87 \\ & 0.84 \end{aligned}$ |
| $\begin{aligned} & 14 \\ & 14 \end{aligned}$ | $400$ | $\begin{aligned} & p=120.50-323.33 w c+266.67 w c^{2} \\ & p=41.61-30.00 w c \end{aligned}$ | $\begin{aligned} & 2.03 \\ & 2.36 \end{aligned}$ | $\begin{aligned} & 8.08 \\ & 9.39 \end{aligned}$ | $\begin{aligned} & 0.734 \\ & 0.58 \end{aligned}$ |
| 7 7 | $400$ | $\begin{aligned} & p=53.67-96.67 w c+66.67 w^{2} \\ & p=33.94-23.33 w c \end{aligned}$ | $\begin{aligned} & 1.60 \\ & 1.52 \end{aligned}$ | $\begin{aligned} & 7.57 \\ & 7.21 \end{aligned}$ | $\begin{aligned} & 0.69 \\ & 0.668 \end{aligned}$ |
| 3 | $400$ | $\begin{aligned} & p=79.46-196.67 w c+150.0 w c^{2} \\ & p=35.08-31.67 w c \end{aligned}$ | $\begin{aligned} & 1.11 \\ & 1.30 \end{aligned}$ | $\begin{aligned} & 6.26 \\ & 7.36 \end{aligned}$ | $\begin{aligned} & 0.898 \\ & 0.836 \end{aligned}$ |
| $\begin{aligned} & 28 \\ & 28 \end{aligned}$ | $\begin{aligned} & 300 \\ & 300 \end{aligned}$ | $\begin{aligned} & p=94.29-206.67 w c+150.0 w c^{2} \\ & p=49.92-41.67 w c \end{aligned}$ | $\begin{aligned} & 1.795 \\ & 1.845 \end{aligned}$ | $\begin{aligned} & 6.65 \\ & 6.83 \end{aligned}$ | $\begin{aligned} & 0.849 \\ & 0.814 \end{aligned}$ |
| 14 | $300$ | $\begin{aligned} & p=64.0-110.0 w c+66.67 w^{2} \\ & p=44.28-36.67 w c \end{aligned}$ | $\begin{aligned} & 2.285 \\ & 2.146 \end{aligned}$ | $\begin{aligned} & 9.48 \\ & 8.90 \end{aligned}$ | $\begin{aligned} & 0.722 \\ & 0.715 \end{aligned}$ |
| 7 | $300$ | $\begin{aligned} & p=85.58-213.33 w c+166.67 w c^{2} \\ & p=36.28-30.00 w c \end{aligned}$ | $\begin{aligned} & 3.83 \\ & 3.66 \end{aligned}$ | $\begin{aligned} & 19.36 \\ & 18.49 \end{aligned}$ | $\begin{aligned} & 0.404 \\ & 0.366 \end{aligned}$ |
| 3 3 | 300 | $\begin{aligned} & \mathrm{p}=38.75-56.67 w c+33.33 w c^{2} \\ & \mathrm{p}=28.89-20.00 w c \end{aligned}$ | $\begin{aligned} & 2.186 \\ & 2.03 \end{aligned}$ | $\begin{aligned} & 12.22 \\ & 11.36 \end{aligned}$ | $\begin{aligned} & 0.458 \\ & 0.45 \end{aligned}$ |

Table 4.9: Experimental data for Jabel Dhahran aggregate concrete by using different cement contents, W/C=0.55.

| CC | AGE | EC (MPa) | LOK (kN) |
| :--- | :--- | :--- | :--- |
| 300 | 28 | 25.58 | 21.00 |
| 300 | 14 | 24.96 | 19.67 |
| 300 | 3 | 11.71 | 15.0 |
| 350 | 28 | 27.79 | 22.00 |
| 350 | 14 | 25.16 | 19.00 |
| 350 | 3 | 20.79 | 15.0 |
| 400 | 28 | 30.40 | 25.00 |
| 400 | 14 | 26.33 | 23.33 |
| 400 | 3 | 18.90 | 16.67 |
| 450 | 28 | 29.90 | 25.00 |
| 450 | 14 | 27.00 | 23.00 |
| 450 | 3 | 22.91 | 18.00 |

Table 4.10:The relationship between Lok strength and cement content for Jabel Dhahran aggregate and statistical parameters

| DAY | Model | $\sqrt{\text { MSE }}$ | C.V | COR |
| :--- | :--- | :--- | :--- | :--- |
| 28 | $P=11.84+0.031 C C$ | 1.06 | 4.53 | 0.92 |
| 14 | $P=6.51+0.041 C C$ | 1.47 | 6.74 | 0.91 |
| 3 | $P=16.17-0.003 C C$ | 1.34 | 8.85 | 0.5 |

Table 4.1la: Experimental data for Jabel Dhahran aggregate concrete at 14 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (NPa) | CAP (kN) |
| :--- | :--- | :--- |
| .70 | 16.20 | 15 |
| .70 | 15.54 | 14 |
| .70 | 15.32 | 13 |
| .65 | 16.58 | 16 |
| .65 | 15.89 | 15 |
| .65 | 15.61 | 13 |
| .55 | 25.45 | 21 |
| .55 | 25.35 | 18 |
| .55 | 24.09 | 15 |
| .45 | 25.91 | 22 |
| .45 | 23.52 | 20 |
| .45 | 22.90 | 18 |

Table 4.11b: Experimental data for Jabel Dhahran aggregate concrete at 28 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| $W / C$ | $E C$ (MPa) | CAP (kN) |
| :--- | :--- | :--- |
| .70 | 19.85 | 18 |
| .70 | 18.95 | 16 |
| .70 | 17.63 | 14 |
| .65 | 20.09 | 17 |
| .65 | 19.02 | 15 |
| .65 | 18.53 | 14 |
| .55 | 26.82 | 21 |
| .55 | 25.35 | 19 |
| .55 | 24.58 | 17 |
| .45 | 29.35 | 25 |
| .45 | 28.30 | 23 |
| .45 | 27.85 | 19 |

Table 4.11c: Experimental data for Jabel Dhahran aggregate concrete at 91 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| $W / C$ | $E C(M P a)$ | CAP (kN) |
| :--- | :--- | :--- |
| .65 | 20.85 | 19 |
| .65 | 19.51 | 18 |
| .65 | 17.10 | 16 |
| .55 | 26.22 | 23 |
| .55 | 24.90 | 20 |
| .55 | 24.01 | 18 |
| .45 | 29.65 | 26 |
| .45 | 28.94 | 24 |
| .45 | 27.25 | 21 |

Table 4.11d: Experimental data for Jabel Dhahran aggregate concrete at 14 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| $W / C$ | EC (NPa) | CAP (kN) |
| :--- | :--- | :--- |
| .70 | 18.42 | 16 |
| .70 | 16.66 | 14 |
| .70 | 14.91 | 13 |
| .65 | 20.97 | 19 |
| .65 | 20.67 | 18 |
| .65 | 19.31 | 16 |
| .55 | 29.54 | 22 |
| .55 | 29.07 | 19 |
| .55 | 25.84 | 18 |
| .45 | 32.67 | 30 |
| .45 | 30.62 | 28 |
| .45 | 30.23 | 26 |

Table 4.11e: Experimental data for Jabel Dhahran aggregate concrete at 28 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | CAP (kN) |
| :--- | :--- | :--- |
| .70 | 20.39 | 18 |
| .70 | 19.73 | 15 |
| .70 | 19.30 | 13 |
| .65 | 25.35 | 21 |
| .65 | 24.18 | 17 |
| .65 | 22.92 | 16 |
| .55 | 30.72 | 24 |
| .55 | 30.72 | 21 |
| .55 | 29.74 | 20 |
| .45 | 36.08 | 30 |
| .45 | 35.59 | 29 |
| .45 | 33.65 | 27 |

Table 4.11f: Experimental data for Jabel Dhahran aggregate concrete at 91 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | CAP (kN) |
| :--- | :--- | :--- |
| .65 | 25.84 | 24 |
| .65 | 23.89 | 22 |
| .65 | 23.40 | 20 |
| .55 | 33.64 | 29 |
| .55 | 33.15 | 26 |
| .55 | 32.67 | 24 |
| .45 | 37.54 | 34 |
| .45 | 36.57 | 32 |
| .45 | 33.15 | 29 |

Table 4.12a: Experimental data for Abu-Hadriyah aggregate concrete at 14 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | CAP (kN) |
| :--- | :--- | :--- |
| .65 | 25.16 | 19 |
| .65 | 24.09 | 18 |
| .65 | 22.82 | 17 |
| .55 | 29.07 | 24 |
| .55 | 28.31 | 24 |
| .55 | 28.04 | 22 |
| .45 | 36.08 | 29 |
| .45 | 33.74 | 28 |
| .45 | 25.78 | 25 |

Table 4.12b: Experimental data for Abu-Hadriyah aggregate concrete at 28 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | CAP (kN) |
| :--- | :--- | :--- |
| .65 | 26.53 | 24 |
| .65 | 26.33 | 20 |
| .65 | 24.96 | 18 |
| .55 | 30.72 | 27 |
| .55 | 29.25 | 26 |
| .55 | 26.53 | 23 |
| .45 | 36.28 | 30 |
| .45 | 35.40 | 28 |
| .45 | 34.62 | 26 |

Table 4.12c: Experimental data for Abu-Hadriyah aggregate concrete at 91 days, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | CAP (kN) |
| :--- | :--- | :--- |
| .65 | 27.40 | 26 |
| .65 | 26.72 | 24 |
| .65 | 25.10 | 21 |
| .55 | 31.20 | 29 |
| .55 | 29.57 | 26 |
| .55 | 27.23 | 22 |
| .45 | 36.51 | 31 |
| .45 | 35.28 | 28 |
| .45 | 34.70 | 25 |

Table 4.12d: Experimental data for Abu-Hadriyah aggregate concrete at 14 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | CAP (kN) |
| :--- | :--- | :--- |
| .65 | 26.33 | 24 |
| .65 | 25.65 | 22 |
| .65 | 24.87 | 20 |
| .55 | 30.95 | 25 |
| .55 | 30.23 | 22 |
| .55 | 28.24 | 22 |
| .45 | 34.70 | 30 |
| .45 | 33.58 | 27 |
| .45 | 28.87 | 24 |

Table 4.12e: Experimental data for Abu-Hadriyah aggregate concrete at 28 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| $W / C$ | FC (MPa) | CAP (kN) |
| :--- | :---: | :---: |
| .65 | 31.20 | 26 |
| .65 | 30.72 | 25 |
| .65 | 28.97 | 23 |
| .55 | 35.83 | 29 |
| .55 | 33.29 | 27 |
| .55 | 32.85 | 26 |
| .45 | 37.94 | 32 |
| .45 | 36.86 | 30 |
| .45 | 35.45 | 26 |

Table 4.12f: Experimental data for Abu-Hadriyah aggregate concrete at 91 days, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| $W / C$ | $E C$ (MPa) | CAP (kN) |
| :--- | :--- | :--- |
| .65 | 32.55 | 28 |
| .65 | 30.79 | 28 |
| .65 | 29.64 | 27 |
| .55 | 37.88 | 31 |
| .55 | 36.25 | 30 |
| .55 | 34.14 | 29 |
| .45 | 38.39 | 36 |
| .45 | 37.22 | 31 |
| .45 | 35.53 | 28 |

Table 4.13: Relationships between capo strength and age for Jabel Dhahran aggregate and statistical parameters.

| W/C | CC | Model | $\sqrt{\text { MSE }}$ | C.V | $\mathrm{R}^{2}$ |
| :---: | :---: | :---: | :---: | :---: | :---: |
| . 45 | 400 | $\mathrm{P}=27.33+.048 \mathrm{D}-.000 \mathrm{D}^{2}$ | 2.055 | 6.98 | 0.475 |
| . 45 | 400 | $\mathrm{P}=27.33+0.0476 \mathrm{D}$ | 1.90 | 6.46 | 0.475 |
| . 55 | 400 | $P=17.32+0.18 D-0.0009 D^{2}$ | 2.23 | 9.91 | 0.71 |
| . 55 | 400 | $\mathrm{P}=18.89+.0828 \mathrm{D}$ | 2.11 | 9.344 | 0.69 |
| . 65 | 400 | $P=17.54+0.002 \mathrm{D}-.0005 \mathrm{D}^{2}$ | 2.11 | 10.97 | 0.567 |
| . 65 | 400 | $\mathrm{P}=16.629+.0585 \mathrm{D}$ | 1.965 | 10.22 | 0.56 |
| . 45 | 300 | $P=16.93+0.246 \mathrm{D}-.0019 \mathrm{D}^{2}$ | 2.56 | 11.64 | 0.34 |
| . 45 | 300 | $\mathrm{P}=20.25+.04 \mathrm{D}$ | 2.51 | 11.43 | 0.26 |
| . 55 | 300 | $\mathrm{P}=16.74+.099 \mathrm{D}-.0007 \mathrm{D}^{2}$ | 2.54 | 13.28 | 0.18 |
| . 55 | 300 | $\mathrm{P}=17.89+.028 \mathrm{D}$ | 2.37 | 12.39 | 0.16 |
| . 65 | 300 | $\mathrm{P}=13.95+.053 \mathrm{D}-.00014 \mathrm{D}^{2}$ | 1.53 | 9.61 | 0.52 |
| . 65 | 300 | $\mathrm{P}=14.19+.038 \mathrm{D}$ | 1.42 | 8.91 | 0.51 |

Table 4.14: Relationships between capo strength and age for Abu-Hadriyah aggregate and statistical parameters.

| W/C | cc | Model | $\sqrt{\text { MSE }}$ | C.V | $\mathrm{R}^{2}$ |
| :---: | :---: | :---: | :---: | :---: | :---: |
| . 45 | 400 | $\mathrm{P}=24.01+.237 \mathrm{D}-.0017 \mathrm{D}^{2}$ | 3.40 | 11.59 | 0.32 |
| . 45 | 400 | $\mathrm{P}=26.97+0.053 \mathrm{D}$ | 3.23 | 11.03 | 0.28 |
| . 55 | 400 | $\mathrm{P}=17.31+0.455 \mathrm{D}-0.0035 \mathrm{D}^{2}$ | 1.45 | 5.43 | 0.86 |
| . 55 | 400 | $\mathrm{P}=23.41+.076 \mathrm{D}$ | 2.04 | 7.62 | 0.67 |
| . 65 | 400 | $\mathrm{P}=17.64+0.348 \mathrm{D}-0.003 \mathrm{D}^{2}$ | 1.247 | 4.99 | 0.84 |
| . 65 | 400 | $\mathrm{P}=22.23+.062 \mathrm{D}$ | 1.63 | 6.53 | 0.68 |
| . 45 | 300 | $\mathrm{P}=26.42+0.074 \mathrm{D}-.00062 \mathrm{D}^{2}$ | 2.40 | 8.65 | 0.025 |
| . 45 | 300 | $\mathrm{P}=27.51+.006 \mathrm{D}$ | 2.24 | 8.07 | 0.01 |
| . 55 | 300 | $\mathrm{P}=20.63+.22 \mathrm{D}-.0018 \mathrm{D}^{2}$ | 2.45 | 9.89 | 0.21 |
| . 55 | 300 | $\mathrm{P}=23.77+.023 \mathrm{D}$ | 2.40 | 9.70 | 0.11 |
| . 65 | 300 | $P=14.61+.27 \mathrm{D}-.0019 \mathrm{D}^{2}$ | 2.36 | 11.34 | 0.59 |
| . 65 | 300 | $\mathrm{P}=17.87+.066 \mathrm{D}$ | 2.33 | 11.22 | 0.53 |

Table 4.15: Experimental Capo strength (in kN) at different ages (in days) for Jabel Dhahran aggregate.

| $W / C$ | $C C$ | 14 days | 28 days | 91 days |
| :--- | :--- | :--- | :--- | :--- |
| .70 | 300 | 14.00 | 16.00 | $\ldots$ |
| .65 | 300 | 14.67 | 15.33 | 17.67 |
| .55 | 300 | 18.00 | 19.00 | 20.33 |
| .45 | 300 | 20.00 | 22.33 | 23.67 |
| .70 | 400 | 14.33 | 15.33 | $\ldots$ |
| .65 | 400 | 17.67 | 18.00 | 22.00 |
| .55 | 400 | 19.67 | 21.67 | 26.33 |
| .45 | 400 | 28.00 | 28.67 | 31.67 |

Table 4.16: Experimental Capo strength (in kN) at different ages (in days) for Abu-Hadriyah aggregate.

| W/C | CC | 14 days | 28 days | 91 days |
| :--- | :--- | :--- | :--- | :--- |
| .65 | 300 | 18.00 | 20.67 | 23.67 |
| .55 | 300 | 23.33 | 25.33 | 25.67 |
| .45 | 300 | 27.33 | 28.00 | 28.00 |
| .65 | 400 | 22.00 | 25.33 | 27.67 |
| .55 | 400 | 23.00 | 27.33 | 30.00 |
| .45 | 400 | 27.00 | 29.33 | 31.67 |

Table 4.17: Relationships between capo strength and W/C for Jabel Dhahran aggregate and statistical parameters.

| DAY | CC | Model | $\sqrt{M S E}$ | $C . V$ | $R^{2}$ |
| :--- | :--- | :--- | :--- | :--- | :--- |
| 91 | 400 | $\mathrm{P}=68.04-103.33 \mathrm{wc}+0.50 \mathrm{wc}^{2}$ | 2.36 | 8.84 | 0.81 |
| 91 | 400 | $\mathrm{P}=53.25-48.33 \mathrm{wc}$ | 2.20 | 8.24 | 0.80 |
| 28 | 400 | $\mathrm{P}=79.15-151.66 \mathrm{wc}+87.10 \mathrm{wc}^{2}$ | 2.16 | 10.34 | 0.88 |
| 28 | 400 | $\mathrm{p}=51.25-51.64 \mathrm{wc}$ | 2.14 | 10.25 | 0.865 |
| 14 | 400 | $\mathrm{P}=93.55-207.88 \mathrm{wc}+136.85 \mathrm{wc}{ }^{2}$ | 2.02 | 10.14 | 0.89 |
| 14 | 400 | $\mathrm{P}=49.72-50.73 \mathrm{wc}$ | 2.15 | 10.79 | 0.86 |
| 91 | 300 | $\mathrm{P}=46.92-66.67 \mathrm{wc}+33.33 \mathrm{wc}^{2}$ | 2.23 | 10.88 | 0.644 |
| 91 | 300 | $\mathrm{P}=37.06-30.00 \mathrm{wc}$ | 2.08 | 10.11 | 0.64 |
| 28 | 300 | $\mathrm{P}=61.27-123.78 \mathrm{wc}+83.59 \mathrm{wc}^{2}$ | 2.177 | 11.98 | 0.68 |
| 28 | 300 | $\mathrm{P}=34.50-27.80 \mathrm{wc}$ | 2.15 | 11.83 | 0.65 |
| 14 | 300 | $\mathrm{P}=28.53-14.54 \mathrm{wc}-9.38 \mathrm{wc}^{2}$ | 1.94 | 11.62 | 0.68 |
| 14 | 300 | $\mathrm{P}=31.54-25.31 \mathrm{wc}$ | 1.84 | 11.03 | 0.677 |

Table 4.18: Relationships between capo strength and W/c for Abu-Hadriyya aggregate and statistical parameters.

| DAY | cc | Model | $\sqrt{\text { MSE }}$ | C.V | $\mathrm{R}^{2}$ |
| :---: | :---: | :---: | :---: | :---: | :---: |
| 91 | $\begin{aligned} & 400 \\ & 400 \end{aligned}$ | $\begin{aligned} & p=30.92+16.67 w c-33.33 w c^{2} \\ & p=40.78-20.00 w c \end{aligned}$ | $\begin{aligned} & 2.43 \\ & 2.25 \end{aligned}$ | $\begin{aligned} & 8.15 \\ & 7.57 \end{aligned}$ | $\begin{aligned} & 0.41 \\ & 0.40 \end{aligned}$ |
| $\left\lvert\, \begin{aligned} & 28 \\ & 28 \end{aligned}\right.$ | $\begin{aligned} & 400 \\ & 400 \end{aligned}$ | $\begin{aligned} & p=38.33-20.00 w c+3.11 w c^{2} \\ & p=38.33-20.00 w c \end{aligned}$ | $\begin{aligned} & 2.00 \\ & 1.852 \end{aligned}$ | $\begin{gathered} 7.32 \\ 6.77 \end{gathered}$ | $\begin{aligned} & 0.50 \\ & 0.50 \end{aligned}$ |
| $\begin{aligned} & 14 \\ & 14 \end{aligned}$ | $400$ | $\begin{aligned} & p=82.13-190.0 w c+150.0 w c^{2} \\ & p=37.75-25.00 w c \end{aligned}$ | $\begin{aligned} & 2.31 \\ & 2.28 \end{aligned}$ | $\begin{aligned} & 9.62 \\ & 9.52 \end{aligned}$ | $\begin{aligned} & 0.57 \\ & 0.51 \end{aligned}$ |
| 91 91 | $\left\lvert\, \begin{aligned} & 300 \\ & 300 \end{aligned}\right.$ | $\begin{aligned} & p=42.63-40.00 w c+16.67 w^{2} \\ & p=37.69-21.67 w c \end{aligned}$ | $\begin{aligned} & 3.04 \\ & 2.81 \end{aligned}$ | $\begin{aligned} & 11.78 \\ & 10.91 \end{aligned}$ | $\begin{aligned} & 0.34 \\ & 0.337 \end{aligned}$ |
| 28 | $300$ | $\begin{aligned} & p=15.25+73.33 w c-100.00 w c^{2} \\ & p=44.83-36.67 w c \end{aligned}$ | $\begin{aligned} & 2.43 \\ & 2.31 \end{aligned}$ | $\begin{aligned} & 9.838 \\ & 9.36 \end{aligned}$ | $\begin{aligned} & 0.70 \\ & 0.68 \end{aligned}$ |
| 14 14 | 300 | $\begin{aligned} & p=28.83+26.67 w c-66.67 w c^{2} \\ & p=48.56-46.67 w c \end{aligned}$ | $\begin{aligned} & 1.49 \\ & 1.43 \end{aligned}$ | $\begin{aligned} & 6.51 \\ & 6.23 \end{aligned}$ | $\begin{aligned} & 0.91 \\ & 0.90 \end{aligned}$ |

Table 4.19: Relationships between compressive strength and age for Jabel Dhahran aggregate and statistical parameters.

| W/C | CC | Model | $\sqrt{\text { MSE }}$ | C.V | $\mathrm{R}^{2}$ |
| :---: | :---: | :---: | :---: | :---: | :---: |
| $\begin{aligned} & .45 \\ & .45 \end{aligned}$ | $400$ | $\begin{aligned} & F_{c}=24.74+.55 D-.0064 D^{2} \\ & F_{C}=25.74+0.345 D \end{aligned}$ | $\begin{aligned} & 1.09 \\ & 1.12 \end{aligned}$ | $\begin{aligned} & 3.60 \\ & 3.72 \end{aligned}$ | $\begin{aligned} & 0.93 \\ & 0.91 \end{aligned}$ |
| .55 .55 | $400$ | $\begin{aligned} & F_{c}=14.32+1.24 \mathrm{D}-0.024 \mathrm{D}^{2} \\ & \mathrm{~F}_{\mathrm{C}}=18.00+.49 \mathrm{D} \end{aligned}$ | $\begin{aligned} & 1.94 \\ & 2.47 \end{aligned}$ | $\begin{aligned} & 7.96 \\ & 10.15 \end{aligned}$ | $\begin{aligned} & 0.89 \\ & 0.81 \end{aligned}$ |
| .65 .65 | $\begin{aligned} & 400 \\ & 400 \end{aligned}$ | $\begin{aligned} & F_{c}=13.77+0.644 D-0.01 D^{2} \\ & F_{C}=15.31+.33 D \end{aligned}$ | $\begin{aligned} & 1.28 \\ & 1.39 \\ & \hline \end{aligned}$ | $\begin{aligned} & 6.51 \\ & 7.11 \end{aligned}$ | $\begin{aligned} & 0.89 \\ & 0.86 \end{aligned}$ |
| .45 .45 | $\begin{aligned} & 300 \\ & 300 \end{aligned}$ | $\begin{aligned} & F_{\mathrm{C}}=10.14+1.29 \mathrm{D}-.0227 \mathrm{D}^{2} \\ & F_{\mathrm{C}}=13.69+.57 \mathrm{D} \end{aligned}$ | $\begin{aligned} & 1.44 \\ & 2.09 \end{aligned}$ | $\begin{aligned} & 6.82 \\ & 9.94 \end{aligned}$ | $\begin{aligned} & 0.95 \\ & 0.89 \end{aligned}$ |
| .55 <br> .55 | 300 | $\begin{aligned} & \mathrm{F}_{\mathrm{C}}=7.29+2.07 \mathrm{D}-.051 \mathrm{D}^{2} \\ & \mathrm{~F}_{\mathrm{C}}=15.25+.44 \mathrm{D} \end{aligned}$ | $\begin{aligned} & 1.97 \\ & 4.02 \end{aligned}$ | $\begin{aligned} & 9.39 \\ & 19.15 \end{aligned}$ | $\begin{aligned} & 0.91 \\ & 0.57 \end{aligned}$ |
| .65 .65 | 300 | $\begin{aligned} & F_{C}=6.14+.981 D-.0184 D^{2} \\ & F_{C}=9.01+.393 D \end{aligned}$ | $\begin{aligned} & 0.60 \\ & 1.41 \end{aligned}$ | $\begin{aligned} & 4.22 \\ & 9.95 \end{aligned}$ | $\begin{aligned} & 0.98 \\ & 0.90 \end{aligned}$ |

Table 4.20: Relationships between compressive strength and age for Abu-Hadriyah aggregate and statistical parameters.

| W/C | CC | Model | $\sqrt{\text { MSE }}$ | C.V | $\mathrm{R}^{2}$ |
| :---: | :---: | :---: | :---: | :---: | :---: |
| $\begin{array}{\|l} .45 \\ .45 \end{array}$ | $400$ | $\begin{aligned} & F_{c}=20.16+1.25 \mathrm{D}-.025 \mathrm{D}^{2} \\ & \mathrm{~F}_{\mathrm{C}}=24.03+0.46 \mathrm{D} \end{aligned}$ | $\begin{aligned} & 2.16 \\ & 2.68 \end{aligned}$ | $\begin{array}{r} 7.20 \\ 8.94 \\ \hline \end{array}$ | $\begin{aligned} & 0.86 \\ & 0.76 \\ & \hline \end{aligned}$ |
| $\begin{array}{\|r} .55 \\ .55 \\ \hline \end{array}$ | $\begin{aligned} & 400 \\ & 400 \end{aligned}$ | $\begin{aligned} & F_{c}=10.41+1.94 \mathrm{D}-0.037 \mathrm{D}^{2} \\ & \mathrm{~F}_{\mathrm{C}}=16.26+.74 \mathrm{D} \end{aligned}$ | $\begin{aligned} & 1.29 \\ & 2.89 \end{aligned}$ | $\begin{aligned} & 4.98 \\ & 11.14 \end{aligned}$ | $\begin{aligned} & 0.98 \\ & 0.88 \end{aligned}$ |
| $\begin{array}{\|l} .65 \\ .65 \end{array}$ | $\begin{aligned} & 400 \\ & 400 \end{aligned}$ | $\begin{aligned} & F_{c}=16.50+0.86 \mathrm{D}-0.013 \mathrm{D}^{2} \\ & \mathrm{~F}_{\mathrm{c}}=18.55+.44 \mathrm{D} \end{aligned}$ | $\begin{aligned} & 1.19 \\ & 1.46 \end{aligned}$ | $\begin{aligned} & 4.92 \\ & 6.01 \end{aligned}$ | $\begin{aligned} & 0.94 \\ & 0.91 \end{aligned}$ |
| .45 $.45$ | $300$ | $\begin{aligned} & F_{C}=21.98+0.99 D-.0182 D^{2} \\ & F_{C}=24.82+.410 \end{aligned}$ | $\begin{aligned} & 2.75 \\ & 2.99 \end{aligned}$ | $\begin{aligned} & 9.12 \\ & 9.63 \end{aligned}$ | $\begin{aligned} & 0.74 \\ & 0.68 \end{aligned}$ |
| .55 .55 | $\begin{aligned} & 300 \\ & 300 \end{aligned}$ | $\begin{aligned} & F_{C}=12.76+1.77 \mathrm{D}-.043 \mathrm{D}^{2} \\ & F_{\mathrm{C}}=19.43+.40 \mathrm{D} \end{aligned}$ | $\begin{aligned} & 1.49 \\ & 3.30 \end{aligned}$ | $\begin{aligned} & 6.04 \\ & 13.41 \end{aligned}$ | $\begin{aligned} & 0.93 \\ & 0.62 \end{aligned}$ |
| .65 .65 | 300 | $\begin{aligned} & F_{c}=11.47+1.32 D-.029 D^{2} \\ & F_{C}=15.94+0.402 D \end{aligned}$ | 1.18 2.29 | $\begin{aligned} & 5.56 \\ & 10.83 \end{aligned}$ | $\begin{aligned} & 0.95 \\ & 0.77 \end{aligned}$ |

Table 4.21: Experimental Compressive strength (in MPa) at different ages (in days) for Jabel Dahran aggregate.

| W/C | CC | 3 days | 7 days | 14 days | 28 days | 91 days |
| :--- | :--- | :--- | :--- | :--- | :--- | :--- |
| .70 | 300 | 10.29 | 12.32 | 15.69 | 18.81 | $\ldots$ |
| .65 | 300 | 8.68 | 12.55 | 16.03 | 19.21 | 19.15 |
| .55 | 300 | 11.71 | 21.81 | 24.96 | 25.58 | 25.04 |
| .45 | 300 | 14.21 | 17.52 | 24.11 | 28.50 | 28.61 |
| .70 | 400 | 9.43 | 14.21 | 16.66 | 19.80 | $\ldots$ |
| .65 | 400 | 15.09 | 18.79 | 20.32 | 24.15 | 24.38 |
| .55 | 400 | 18.90 | 19.86 | 28.15 | 30.40 | 33.15 |
| .45 | 400 | 26.33 | 28.28 | 31.17 | 35.11 | 35.75 |

Table 4.22: Experinental Compressive strength (in MPa) at different ages (in days) for Abu-Hadriyah aggregate.

| W/C | CC | 3 days | 7 days | 14 days | 28 days | 91 days |
| :--- | :--- | :--- | :--- | :--- | :--- | :--- |
| .65 | 300 | 14.89 | 19.80 | 24.02 | 25.94 | 26.40 |
| .55 | 300 | 17.03 | 24.25 | 28.47 | 28.83 | 29.33 |
| .45 | 300 | 24.41 | 28.70 | 31.87 | 35.43 | 35.50 |
| .65 | 400 | 15.20 | 22.49 | 25.62 | 30.30 | 30.99 |
| .55 | 400 | 16.09 | 21.78 | 29.64 | 34.00 | 36.09 |
| .45 | 400 | 23.24 | 28.58 | 32.38 | 36.75 | 37.05 |

Table 4.23a: Relationships between compressive strength and WIC for Jabel Dhahran aggregate and statistical parameters.

| DAY | Model | $\sqrt{\text { MSE }}$ | C.V | $\mathrm{R}^{2}$ |
| :---: | :---: | :---: | :---: | :---: |
| $\begin{aligned} & 91 \\ & 91 \end{aligned}$ | $\begin{aligned} & F_{c}=-28.98+282.83 w c-308.83 w^{2} \\ & F_{c}=62.38-56.88 w c \end{aligned}$ | $\begin{aligned} & 1.55 \\ & 2.19 \end{aligned}$ | $\begin{aligned} & 5.00 \\ & 7.04 \end{aligned}$ | $\begin{aligned} & 0.94 \\ & 0.85 \end{aligned}$ |
| $\begin{array}{l\|l} 28 \\ 28 \end{array}$ | $\begin{aligned} & F_{c}=30.46+55.80 w c-101.24 w^{2} \\ & F_{c}=62.88-60.46 w c \end{aligned}$ | $\begin{aligned} & 0.93 \\ & 1.14 \end{aligned}$ | $\begin{aligned} & 3.38 \\ & 4.15 \end{aligned}$ | $\begin{aligned} & 0.98 \\ & 0.97 \end{aligned}$ |
| $\begin{aligned} & 14 \\ & 14 \end{aligned}$ | $\begin{aligned} & \mathrm{F}_{\mathrm{c}}=7.35+125.92 w c-161.56 \mathrm{wc}^{2} \\ & \mathrm{~F}_{\mathrm{c}}=59.09-59.59 \mathrm{wc} \end{aligned}$ | $\begin{aligned} & 1.54 \\ & 1.86 \end{aligned}$ | $\begin{aligned} & 6.40 \\ & 7.72 \end{aligned}$ | $\begin{aligned} & 0.95 \\ & 0.92 \end{aligned}$ |
| 7 7 | $\begin{aligned} & F_{c}=84.38-174.0 w c+107.58 w^{2} \\ & F_{c}=49.93-50.45 w c \end{aligned}$ | $\begin{aligned} & 1.92 \\ & 1.97 \end{aligned}$ | $\begin{aligned} & 9.45 \\ & 9.73 \end{aligned}$ | $\begin{aligned} & 0.90 \\ & 0.88 \end{aligned}$ |
| 3 | $\begin{aligned} & F_{c}=50.05-47.17 w c-13.83 w c^{2} \\ & F_{c}=54.48-63.05 w c \end{aligned}$ | $\begin{aligned} & 1.53 \\ & 1.45 \end{aligned}$ | $\begin{aligned} & 8.75 \\ & 8.32 \end{aligned}$ | $\begin{aligned} & 0.95 \\ & 0.95 \end{aligned}$ |

$$
C C=400 \mathrm{Kg} / \mathrm{m}^{3}
$$

Table 4.23b: Relationships between compressive strength and WIC for Jabel Dhahran aggregate and statistical parameters.

| DAY | Model | $\sqrt{\text { MSE }}$ | $\mathrm{C} . \mathrm{V}$ | $\mathrm{R}^{2}$ |
| :--- | :--- | :--- | :--- | :--- |
| 91 | $\mathrm{~F}_{\mathrm{C}}=15.97+80.30 \mathrm{wc}-116.00 \mathrm{wc}^{2}$ | 1.46 | 6.00 | 0.91 |
| 91 | $\mathrm{~F}_{\mathrm{C}}=50.29-47.30 \mathrm{wc}$ | 1.49 | 6.12 | 0.90 |
| 28 | $\mathrm{~F}_{\mathrm{c}}=42.46-22.84 \mathrm{wc}-16.98 \mathrm{wc}^{2}$ | 1.32 | 5.71 | 0.93 |
| 28 | $\mathrm{~F}_{\mathrm{C}}=47.90-42.34 \mathrm{wc}$ | 1.25 | 5.44 | 0.93 |
| 14 | $\mathrm{~F}_{\mathrm{C}}=-17.52+179.78 \mathrm{wc}-191.63 \mathrm{wc}^{2}$ | 2.01 | 9.97 | 0.84 |
| 14 | $\mathrm{~F}_{\mathrm{C}}=43.85-40.27 \mathrm{wc}$ | 2.35 | 11.62 | 0.77 |
| 7 | $\mathrm{~F}_{\mathrm{C}}=-68.11+333.45 \mathrm{wc}-315.32 \mathrm{wc}^{2}$ | 2.37 | 14.79 | 0.74 |
| 7 | $\mathrm{~F}_{\mathrm{C}}=32.87-28.63 \mathrm{wc}$ | 3.18 | 19.80 | 0.47 |
| 3 | $\mathrm{~F}_{\mathrm{C}}=53.14-129.95 \mathrm{wc}+97.11 \mathrm{wc}^{2}$ | 1.31 | 11.68 | 0.73 |
|  | $\mathrm{~F}_{\mathrm{c}}=22.04-18.44 \mathrm{wc}$ | 1.42 | 12.68 | 0.65 |

$C C=300 \mathrm{Kg} / \mathrm{m}^{3}$

Table 4.24a: Relationships between compressive strength and WIC for Abu-Hadriyah aggregate and statistical parameters.

| DAY | Model | $\sqrt{\text { MSE }}$ | $\mathrm{C} . \mathrm{V}$ | $\mathrm{R}^{2}$ |
| :--- | :--- | :--- | :--- | :--- |
| 91 | $\mathrm{~F}_{\mathrm{C}}=-9.88+197.43 \mathrm{wc}-207.00 \mathrm{wc}^{2}$ | 1.61 | 4.63 | 0.80 |
| 91 | $\mathrm{~F}_{\mathrm{C}}=51.36-30.27 \mathrm{wc}$ | 1.85 | 5.34 | 0.70 |
| 28 | $\mathrm{~F}_{\mathrm{c}}=22.19+70.87 \mathrm{wc}-89.83 \mathrm{wc}^{2}$ | 1.93 | 5.77 | 0.69 |
| 28 | $\mathrm{~F}_{\mathrm{C}}=48.76-27.95 \mathrm{wc}$ | 1.85 | 5.53 | 0.66 |
| 14 | $\mathrm{~F}_{\mathrm{C}}=-27.67+235.70 \mathrm{wc}-236.50 \mathrm{wc}^{2}$ | 1.51 | 5.22 | 0.78 |
| 14 | $\mathrm{~F}_{\mathrm{C}}=42.30-24.45 \mathrm{wc}$ | 1.88 | 6.53 | 0.59 |
| 7 | $\mathrm{~F}_{\mathrm{C}}=152.10-443.47 \mathrm{wc}+375.50 \mathrm{wc}^{2}$ | 1.17 | 4.83 | 0.91 |
| 7 | $\mathrm{~F}_{\mathrm{C}}=41.01-30.42 \mathrm{wc}$ | 2.28 | 9.40 | 0.60 |
| 3 | $\mathrm{~F}_{\mathrm{C}}=175.19-555.47 \mathrm{wc}+484.00 \mathrm{wc}^{2}$ | 1.28 | 6.61 | 0.89 |
| 3 | $\mathrm{~F}_{\mathrm{C}}=32.00-23.07 \mathrm{wc}$ | 2.84 | 14.72 | 0.36 |

$C C=400 \mathrm{Kg} / \mathrm{m}^{3}$

Table 4.24b: Relationships between compressive strength and W/C for Abu-Hadriyah aggregate and statistical parameters.

| DAY | Model | $\sqrt{M S E}$ | C.V | $\mathrm{R}^{2}$ |
| :---: | :---: | :---: | :---: | :---: |
| $\left\lvert\, \begin{aligned} & 91 \\ & 91 \end{aligned}\right.$ | $F_{c}=103.29-223.47 w c+161.83 w c^{2}$ <br> FsubC $=55.41-45.45 \mathrm{wc}$ | $\begin{aligned} & 1.44 \\ & 1.59 \end{aligned}$ | $\begin{aligned} & 4.74 \\ & 5.23 \end{aligned}$ | $\begin{aligned} & 0.91 \\ & 0.88 \end{aligned}$ |
| $\begin{aligned} & 28 \\ & 28 \end{aligned}$ | $\begin{aligned} & \mathrm{F}_{\mathrm{c}}=111.00-251.33 \mathrm{wc}-185.33 \mathrm{wc}^{2} \\ & \mathrm{~F}_{\mathrm{C}}=56.18-47.47 \mathrm{wc} \end{aligned}$ | $\begin{aligned} & 1.41 \\ & 1.64 \end{aligned}$ | $\begin{aligned} & 4.68 \\ & 5.44 \end{aligned}$ | $\begin{aligned} & 0.92 \\ & 0.88 \end{aligned}$ |
| $\begin{aligned} & 14 \\ & 14 \end{aligned}$ | $\begin{aligned} & F_{c}=34.06+18.90 w c-52.83 w c^{2} \\ & F_{C}=49.69-39.22 w c \end{aligned}$ | $\begin{aligned} & 3.21 \\ & 2.98 \end{aligned}$ | $\begin{aligned} & 11.40 \\ & 10.60 \end{aligned}$ | $\begin{aligned} & 0.60 \\ & 0.60 \end{aligned}$ |
| 7 | $\begin{aligned} & F_{c}=48.88-45.07 w c+0.50 w^{2} \\ & F_{c}=48.73-44.52 w c \end{aligned}$ | $\begin{aligned} & 1.27 \\ & 1.17 \end{aligned}$ | $\begin{aligned} & 522 \\ & 4.83 \end{aligned}$ | $\begin{aligned} & 0.93 \\ & 0.93 \end{aligned}$ |
| 3 | $\begin{aligned} & F_{c}=122.37-335.43 w c+261.67 w^{2} \\ & F_{c}=44.96-47.60 w c \end{aligned}$ | $\begin{aligned} & 1.04 \\ & 1.70 \end{aligned}$ | $\begin{aligned} & 5.56 \\ & 9.05 \end{aligned}$ | $\begin{aligned} & 0.96 \\ & 0.87 \end{aligned}$ |

$C C=300 \mathrm{Kg} / \mathrm{m}^{3}$

Table 4.25a: Experimental data for Jabel Dhahran aggregate concrete by using different cement contents, W/C=0.55 .

| CC | AGE | FC (MPa) | LOK (kN) |
| :--- | :--- | :--- | :--- |
| 300 | 28 | 25.58 | 21.00 |
| 300 | 14 | 24.96 | 19.67 |
| 300 | 3 | 11.71 | 15.0 |
| 350 | 28 | 27.79 | 22.00 |
| 350 | 14 | 25.16 | 19.00 |
| 350 | 3 | 20.79 | 15.0 |
| 400 | 28 | 30.40 | 25.00 |
| 400 | 14 | 26.33 | 23.33 |
| 400 | 3 | 18.90 | 16.67 |
| 450 | 28 | 29.90 | 25.00 |
| 450 | 14 | 27.00 | 23.00 |
| 450 | 3 | 22.91 | 18.00 |

Table 4.25b:the relationship between compressive strength and CC for Jabel Dhahran aggregate and statistical parameters.

| DAY | Model | $\sqrt{\text { MSE }}$ | C.V | COR |
| :--- | :--- | :--- | :--- | :--- |
| 28 | $F_{C}=17.24+0.029 C C$ | 0.61 | 2.17 | 0.97 |
| 14 | $F_{C}=20.40+0.015 C C$ | 0.29 | 1.10 | 0.97 |
| 3 | $F_{c}=-5.21+0.063 C C$ | 3.21 | 17.30 | 0.84 |

Table 4.26a: Experimental data for Jabel Dhahran aggregate concrete for different $W / C$ ratios, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | LOK (kN) |
| :---: | :---: | :---: |
| .70 | 10.29 | 9.00 |
| .70 | 12.32 | 11.33 |
| .70 | 15.69 | 15.00 |
| .70 | 18.81 | 17.33 |
| .65 | 8.68 | 12.33 |
| .65 | 12.55 | 15.33 |
| .65 | 16.03 | 17.00 |
| .65 | 19.21 | 18.67 |
| .55 | 11.71 | 15.00 |
| .55 | 21.81 | 18.67 |
| .55 | 24.96 | 19.67 |
| .55 | 25.58 | 22.00 |
| .45 | 14.12 | 13.67 |
| .45 | 17.52 | 17.00 |
| .45 | 24.11 | 24.33 |
| .45 | 28.50 | 27.33 |

Table 4.26b: Experimental data for Jabel Dhahran aggregate concrete for different W/C ratios, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | LOK (kN) |
| :---: | :---: | :---: |
| .70 | 9.43 | 13.33 |
| .70 | 14.21 | 15.00 |
| .70 | 16.66 | 15.67 |
| .70 | 19.80 | 16.67 |
| .65 | 15.09 | 14.00 |
| .65 | 18.79 | 16.33 |
| .65 | 20.32 | 19.00 |
| .65 | 24.15 | 20.00 |
| .55 | 18.90 | 16.67 |
| .55 | 19.86 | 18.67 |
| .55 | 28.15 | 23.33 |
| .55 | 30.40 | 25.00 |
| .45 | 26.33 | 23.67 |
| .45 | 28.28 | 26.00 |
| .45 | 31.17 | 30.33 |

Table 4.27a: Experimental data for Abu-Hadriyah aggregate concrete for different $W / C$ ratios, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | LOR (kN) |
| :---: | :---: | :---: |
| .65 | 14.89 | 16.00 |
| .65 | 19.80 | 17.33 |
| .65 | 24.02 | 20.67 |
| .65 | 25.94 | 23.33 |
| .55 | 17.03 | 17.67 |
| .55 | 24.25 | 18.67 |
| .55 | 28.47 | 23.67 |
| .55 | 28.83 | 26.00 |
| .45 | 24.41 | 20.00 |
| .45 | 28.70 | 26.67 |
| .45 | 31.87 | 28.00 |
| .45 | 35.43 | 31.67 |

Table 4.27b: Experimental data for Abu-Hadriyah aggregate concrete for different $W / C$ ratios, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| $W / C$ | $E C(M P a)$ | LOK (kN) |
| :---: | :---: | :---: |
| .65 | 15.20 | 15.00 |
| .65 | 22.49 | 19.00 |
| .65 | 25.62 | 23.00 |
| .65 | 30.30 | 25.67 |
| .55 | 16.09 | 16.67 |
| .55 | 21.78 | 20.67 |
| .55 | 29.64 | 23.33 |
| .55 | 34.00 | 28.00 |
| .45 | 23.24 | 21.33 |
| .45 | 28.58 | 23.67 |
| .45 | 32.38 | 29.00 |
| .45 | 36.75 | 32.67 |

Table 4.28: Relationships between compressive and lok strength for both types of aggregate and statistical parameters.

| Aggr. | CC | Model | $\sqrt{\text { MSE }}$ | C.V | COR |
| :--- | :--- | :--- | :--- | :--- | :--- |
| J-DH. | 300 | $F_{C}=-2.42+1.17 P_{\mathrm{L}}$ | 2.34 | 13.27 | 0.93 |
| J-DH. | 400 | $F_{C}=-2.31+1.21 \mathrm{P}_{\mathrm{L}}$ | 2.00 | 8.97 | 0.96 |
| $\mathrm{~J}-\mathrm{DH}$. | 3008400 | $\mathrm{~F}_{\mathrm{C}}=-2.60+1.21 \mathrm{P}_{\mathrm{L}}$ | 2.06 | 10.29 | 0.95 |
| AB-H. | 300 | $\mathrm{~F}_{\mathrm{C}}=-0.854+1.162 \mathrm{P}_{\mathrm{L}}$ | 2.00 | 7.91 | 0.95 |
| AB-H. | 400 | $F_{\mathrm{C}}=-3.81+1.299 \mathrm{P}_{\mathrm{L}}$ | 1.725 | 6.55 | 0.97 |
| AB-H. | 3008400 | $\mathrm{~F}_{\mathrm{C}}=-2.266+1.23 \mathrm{P}_{\mathrm{L}}$ | 1.8 | 6.98 | 0.96 |
| J. +AB. | 3008400 | $F_{\mathrm{C}}=-2.95+1.24 \mathrm{P}_{\mathrm{L}}$ | 1.95 | 8.68 | 0.96 |

$F_{c}$ in MPa
$P_{L}$ in $k N$

Table 4.29a: Experimental data for Jabel Dhahran aggregate concrete for different $W / C$ ratios, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| $W / C$ | FC (MPa) | CAP (kN) |
| :---: | :---: | :---: |
| .70 | 15.69 | 14.00 |
| .70 | 18.81 | 16.00 |
| .65 | 16.03 | 14.67 |
| .65 | 19.21 | 15.33 |
| .65 | 19.15 | 17.67 |
| .55 | 24.96 | 18.00 |
| .55 | 25.58 | 19.00 |
| .55 | 25.04 | 20.33 |
| .45 | 24.11 | 20.00 |
| .45 | 28.50 | 22.33 |
| .45 | 28.61 | 23.67 |

Table 4.29b: Experimental data for Jabel Dhahran aggregate concrete for different $W / C$ ratios, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | CAP (kN) |
| :---: | :---: | :---: |
| .70 | 16.66 | 14.33 |
| .70 | 19.80 | 15.33 |
| .65 | 20.32 | 17.66 |
| .65 | 24.15 | 18.00 |
| .65 | 24.38 | 22.00 |
| .55 | 28.15 | 19.67 |
| .55 | 30.40 | 21.67 |
| .55 | 33.15 | 26.33 |
| .45 | 31.17 | 28.00 |
| .45 | 35.11 | 28.67 |
| .45 | 35.75 | 31.67 |

Table 4.30a: Experimental data for Abu-Hadriyah aggregate concrete for different $W / C$ ratios, cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | FC (MPa) | CAP (kN) |
| :---: | :---: | :---: |
| .65 | 24.02 | 18.00 |
| .65 | 25.94 | 20.67 |
| .65 | 26.40 | 23.67 |
| .55 | 28.47 | 23.33 |
| .55 | 28.83 | 25.33 |
| .55 | 29.33 | 25.67 |
| .45 | 31.87 | 27.33 |
| .45 | 35.43 | 28.00 |
| .45 | 35.50 | 28.00 |

Table 4.30b: Experimental data for Abu-Hadriyah aggregate concrete for different $W / C$ ratios, cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | EC (MPa) | CAP (kN) |
| :---: | :---: | :---: |
| .65 | 25.62 | 22.00 |
| .65 | 30.30 | 23.67 |
| .65 | 30.99 | 27.67 |
| .55 | 29.64 | 23.00 |
| .55 | 34.00 | 27.33 |
| .55 | 36.09 | 30.00 |
| .45 | 32.38 | 27.00 |
| .45 | 36.75 | 29.33 |
| .45 | 37.05 | 31.67 |

Table 4.31: Relationships between compressive and capo strengt for both types of aggregate and statistical parameters.

| Aggr. | CC | Model | $\sqrt{\text { MSE }}$ | C.V | COR |
| :--- | :--- | :--- | :--- | :--- | :--- |
| J-DH. | 300 | $F_{C}=-3.44+1.41 \mathrm{P}_{\mathrm{C}}$ | 1.665 | 7.45 | 0.94 |
| J-DH. | 400 | $F_{\mathrm{C}}=3.90+1.05 \mathrm{P}_{\mathrm{C}}$ | 2.49 | 9.15 | 0.87 |
| J-DH. | $300 \& 400$ | $\mathrm{~F}_{\mathrm{C}}=1.18+1.17 \mathrm{P}_{\mathrm{C}}$ | 2.18 | 8.82 | 0.94 |
| AB-H. | 300 | $\mathrm{~F}_{\mathrm{C}}=3.19+1.08 \mathrm{P}_{\mathrm{C}}$ | 1.78 | 6.01 | 0.91 |
| AB-H. | 400 | $\mathrm{~F}_{\mathrm{C}}=3.89+1.07 \mathrm{P}_{\mathrm{C}}$ | 1.49 | 4.59 | 0.93 |
| AB-H. | 3008400 | $\mathrm{~F}_{\mathrm{C}}=2.97+1.09 \mathrm{P}_{\mathrm{C}}$ | 1.55 | 4.99 | 0.93 |
| J.+AB. | 3008400 | $\mathrm{~F}_{\mathrm{C}}=1.53+1.15 \mathrm{P}_{\mathrm{C}}$ | 1.88 | 6.82 | 0.95 |

$\mathrm{F}_{\mathrm{c}}$ in MPa
$P_{c}$ in $k N$


FIG. 4.IA RELATIONSH;P OF LOK-STRENGTH AND AGE FOR J. DH., CC=300


WC $0 \cdot 0.45 \quad 0000.55 \quad \geq \geq 0.65 \quad 0000.7$
FIG. 4.1B RELATIONSHIP OF LOK-STRENGTH AND AGE TOR J. DH., CC=400


FIG. 4.2A: RELATIONSHIP OF LOK AND AGE FOR ABU-HAD., CC= 300


WC $000.45 \quad 0 \square 00.55 \times \geq \geq 0.65$
FIG. 4.2B: RELATIONSHIP OF LOK AND AGE FOR ABII-HAD., $C C=400$


$$
\text { DAYS } 000300007 \times 14<0028
$$

FIG. 4.3A: RELATIONSHIP OF LOK STRENGTH ANII W/C FOR J. DH., CC=300


FIG. 4.3B: RELATIONSHIP OF LOK STRENGTH AND W/C FOR J. DH..CC=400

fig. 4.4a: relatlonship of lok strengit and w/C for abu.had, cC=300


fig. 4.48: relationship of lok strength and w/C for abu-had., CC=400


FIG. 4.5 RELATIONSHIP OF LOK and CENENT CONTENT FOR J. dhahran


WC 0.0.0.45 $\quad 0 \square 0.55 \geq \geq \geq 0.65$

FIG. 4.6A RELATIONSHIP BETWEEN CAPO STRENGTH AND AGE FOR J. DH., CC=300


WC $000.45 \quad 0000.55 \geq \geq 0.65 \quad+++0.7$

FIG. 1.68: RELATIONSHIP BETWEEN CAPO STRENGTH AND AGE FOR J. DH., CC=400


FIG. 4.7A: RELATIONSHIP BETWEEN CAPO STRENGTH AND AGE FOR ABU-HAD., CC=300


FIG. 4.78: RELATIONSHIP BETWEEN CAPO STRENGTH AND AGE FOR ABU-HAD., CC=400


FIG. 4.8A RELATIONSHIP BETWEEN CAPO STRENGTH AND W/C FOR J. DH., CC=300


FIG. 4.8B: RELATIONSHIP BETWEEN CAPO STRENGTH AND W/C FOR J. DH., CC=400


FIG. 4.9A: RELATIONSHIP BETWEEN CAPO STRENGTH AND W/C FOR ABU-HAD., CC=300

fig. 4.98: relationship between capo strength and w/C for abu-h., CC=400


HC $0 \cdot 0.45 \quad 0000.55 \quad \geq \geq 0.65 \quad 000$
FIG. 4.10A: RELATIONSHIP OF COMPRESSIVE-STRENGTH AND AGE FOR J. DH., CC=300


FIG. 4.10日: RELATIONSHIP OF COMPRESSIVE-STRENGTH AND AGE FOR J. DH., CC=400


FIG. 4.11A: RELATIONSHIP OF COMPRESSIVE STRENGTH AND AGE FOR ABU-HAD., CC= 300


FIG. 4.118: RELATIONSHIP OF COMPRESSIVE STRENGTH AND AGE FOR ABU-HAD., CC=400


FIG. 4.12A: RELATIONSHIP OF CONPRESSIVE STRENGTH AND W/C FOR J. DH., CC=300


FIG. 4.12B:RELATIONSHIP OF COMPRESSIVESTRENGTH AND W/C FOR J. DH.,CC=400


FIG. 4.13A: RELATIONSHIP OF COMPRESSIVE STRENGTH AND W/C FOR ABU-HAD., CC=300

fig. 4.138: relationship of coupressive strength and w/C for abu-h., cC=400


FIG. 4.14: RELATIONSHIP OF COMPRESSIVE STRENGTH : ND CEMENT CONTENT FOR J. OH


FIG. 4.15A: RELATIONSHIP BETWEEN COMPRESSIVE AND LOK STRENGTH FOR DH.


FIG. 4.15B: RELATIONSHIP BETWEEN COMPRESSIVE AND LOK STRENGIH FOR DH., CC. $=400$


FIG. 4.15C: RELATIONSHIP BETWEEN COMPRESSIVE AND LOK STRENGTH FOR OH., CC=300

$F C=-2.266+1.23 \mathrm{P}$
fig. 4.16A: RELATIONSHIP bETYEEN COMPRESSIVE AND LOK STRENGTH FOR ABU-H.


FIG. 4.16B: RELATIONSHIP BETWEEN COMPRESSIVE AND LOK STRENGTH FOR ABU-H., CC=400


FIG. 4.isc: RELAT: DNS'IIP BETWEEN COMPRESSIVE AND LOK STRENGTH FOR ABU-H., CC=. 300


$$
\mathrm{FC}=1.18+1.17 \mathrm{P}
$$

fig. 4.17A: RELATIONSHIP OF COMPRESSIVE AND CAPO STRENGTH FOR J. DH.-


$$
F C=3.90+1.053 \mathrm{P}
$$

FIG. 1.17日: RELATIONSHIP OF COMPRESSIVE AND CAPO STRENGTH FOR J.OH., CC=400


$$
F C=-3.44+1.11 \mathrm{P}
$$

FIG. 4.17C: RELATIONSHIP OF COMFRESSIVE AND CAPO STRENGTH FOR DH., CC=300


$$
f C=2.97+1.09 \mathrm{~F}
$$

fig. 4.18a: relationship of coupressive ano capo sirength for abu-hadiyah


$\mathrm{FC}=3.89+1.067 \mathrm{FC}$

FIG. 4.18B: RELATIONSHIP OF COMPRESSIVE AND CAPO STRENGTH FOR ABU-HAD.,CC=400


FIr. H.18C: RELATIONSHIP OF COMPRESSIVE AND CAPO STRENGTH FOR ABU-H., CC $=300$

fig. 4.19a: relationship getween compressive and lok strength for whole data of dh. and abu-h.


$$
F C=1.53+1.15 \mathrm{P}
$$

FIG.4.198: RELATIONSHIP OF COMPRESSIVE AND CAPO FOR J. DH. AND ABU-HAD.

## CHAPTER 5

## VERIFICATION OF THE PROPOSED MODELS

### 5.1 General:

In order to examine the applicability of the proposed model for the in-situ concrete, the model has to be tested with some field data. It was not possible to collect such data exclusively for this purpose due to obvious reasons of cost and practical problems. So that, data was taken from other selected projects, also some panels have been prepared for the verification of the proposed model.

### 5.2 Core strength versus cylinder strength:

The actual in-situ concrete strength is often determined by cores taken from the structure, and the proposed models are based on cylinder strength, it is necessary to correlate core strength to cylinder strength, as the core strength is known to be slightly less than cylinder strength.

Core samples used for compressive strength determination must be selected carefully so as to be free of any cracks
and steel reinforcement, with the length/diameter ratio being kept as close to 2.0 as possible. For the purpose of correlating the cylinder strength to the in-situ strength of the panel of identical mix design, three cores of 75 mm diameter were taken from each two panels at 7, 14, 28 and 91 days. The average compressive strength were measured for cores at each age, so as to compare it with the corresponding values of the standard cylinders.

Tables 5.1 and 5.2 show these data and the ratio of core to cylinder strength, for both Jabel Dhahran and AbuHadriyah concrete respectively. From the data in previous tables, it is observed that the core to cylinder strength varied from a maximum of 0.99 to a minimum of 0.73 for Jabel Dhahran, also it varied from 0.97 to . 71 for Abu-Hadriyah but most of the data falling within a narrow band. The average value of core strength to cylinder strength is . 86 for Jabel Dhahran and . 88 for Abu-Hadriyah, indicating a good representation of the average value.

### 5.3 Verification of the models:

The proposed predictive equations of cylinder compressive strength as follows:

Proposed models by using Jabel Dhahran aggregate:

For Lok strength $\mathrm{F}_{\mathrm{C}}=-2.60+1.21 \mathrm{P}_{\mathrm{L}}$

Eor Capo strength $\mathrm{F}_{\mathrm{C}}=1.18+1.165 \mathrm{P}_{\mathrm{C}}$

Proposed models by using Abu-Hadriyah aggregate:

For Lok strength $\mathrm{E}_{\mathrm{C}}=-2.266+1.23 \mathrm{P}_{\mathrm{L}}$

For Capo strength $\mathrm{E}_{\mathrm{C}}=2.97+1.09 \mathrm{P}_{\mathrm{C}}$

Proposed models by using both types of aggregate:
For Lok strength $\mathrm{E}_{\mathrm{C}}=-2.95+1.24 \mathrm{P}_{\mathrm{L}}$

Eor Capo strength $\mathrm{F}_{\mathrm{C}}=1.53+1.15 \mathrm{P}_{\mathrm{C}}$

To examine the applicability of the proposed models for the in-situ concrete, data taken from other mixes, Table 5.3 shows the designation and mix design of the selected panels.

For Jabel Dhahran (DH), slab panels were cast along with some cylinders, by using .55 water cement ratio,
and cement contents of 300,350 and $450 \mathrm{Kg} / \mathrm{M}^{3}$ and the maximum aggregate size is 25 or 20 mm ( 1 or $3 / 4$ inch). 14 inserts for lok-test were fixed in the mold before casting of panels.

Three cylinders were tested for evaluation of 3,7 , 14 and 28 days compressive strength. For some mixes three cores at 7,14 and 28 days were tested, in addition 3 lok-tests at 3, 7, 14 and 28 days and three capo-tests at 14 and 28 days were performed as shown in Table 5.4 .

For Abu-Hadriyah (AB), two slab panels were cast along with some cylinders, by using .63 water cement ratio , $400 \mathrm{Kg} / \mathrm{M}^{3}$ cement content and the maximum aggregate size is 20 mm ( $3 / 4$ inch). Tables 5.5a and 5.5b shows the average experimental data collected. Also some blocks from another project were tested to verify the Capo calibration, for one of these blocks, the average actual cylinder compressive strength was 8.27 MPa and the average Capo strength was 5.60 kn , and the predicted compressive strength was 7.97 by using Eqn. 5.6 which is close to the actual. Tables 5.6 show verification data by using different types of aggregate from Ras-Alkhima and Riyadh, W/C was 0.55 and cement
content was $400 \mathrm{Kg} / \mathrm{M}^{3}$.

Using the previous models, The estimated compressive strength has been determined, and the ratio of actual strength to estimated strength was calculated as shown in Tables 5.

It is observed from the previous tables that the proposed models often slightly underestimate the strength of concrete.

In order to know the accuracy of the combined model Eqn. 5.5 for Lok strength, the model has to be compared with the international calibration equation reported in (8) as follows:
$P=0.90 F_{c}+1.00 \quad$ for $2 k N<P \leq 25 k N$
$P=0.80 F_{c}+5.00 \quad$ for $25 \mathrm{kN}<\mathrm{P} \leq 65 \mathrm{kN}$

By writing the above equations in term of Ec:
$E_{C}=1.11 P-1.11$

$$
\begin{equation*}
E_{C}=1.25 P-6.25 \tag{5.8}
\end{equation*}
$$

Tables 5.7a, 5.7b show results of the verification by using different types of aggregate, where the compressive strength values predicted by the proposed Eqn. (5.5) and the international Eqn. (5.7) and (5.8). Erom Table 5.7a, the average value of Fc actual/Fc estimated is 1.06 and the standard error is 1.57 by using Eqn. (5.5), by using the International Eqn. the average value of Fc actual/Ec estimated is 1.09 and the standard error is 2.43 . In Table 5.7b, the average value of Fc actual/Ec estimated is 1.01 by using Eqn. (5.5) and 1.05 by using the International Eqn., and the standard error is 1.44 and 1.36 respectively, that means the accuracy of both models approximately is the same. Table 5.8 shows the verification of the previous models Eqn. (5.5) and (5.6) by using data from Denmark Ref.(30), the average value of Ec actual/Ec estimated is 1.04 and .97, the standard error is 2.22 and 2.19 respectively for the previous mdels which means that the reliability and accuracy of lok and capo models are close to each other.

Table 5.la: Experimental data for Jabel Dhahran aggregate concrete for cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | AGE <br> (days) | COR (MPa) | FC (MPa) | COR/EC |
| :---: | :---: | :---: | :---: | :---: |
| . 70 | 7 | 9.92 | 12.32 | . 81 |
| . 70 | 14 | 14.44 | 15.69 | . 92 |
| . 70 | 28 | 18.67 | 18.81 | . 99 |
| . 65 | 7 | 10.47 | 12.55 | . 83 |
| . 65 | 14 | 15.07 | 16.03 | . 94 |
| . 65 | 28 | 16.57 | 19.21 | . 86 |
| . 65 | 91 | 16.21 | 19.15 | . 85 |
| . 55 | 7 | 18.35 | 21.81 | . 84 |
| . 55 | 14 | 21.81 | 24.96 | . 87 |
| . 55 | 28 | 23.34 | 25.58 | . 91 |
| . 55 | 91 | 19.71 | 25.04 | . 79 |
| . 45 | 7 | 16.45 | 17.52 | . 94 |
| . 45 | 14 | 23.00 | 24.11 | . 95 |
| . 45 | 28 | 23.23 | 28.50 | . 82 |
| . 45 | 91 | 25.79 | 28.61 | . 90 |

Table 5.1b: Experimental data for Jabel Dhahran aggregate concrete for cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | AGE <br> (days) | COR (MPa) | FC (MPa) | COR/EC |
| :---: | :---: | :---: | :---: | :---: |
| . 70 | 7 | 12.55 | 14.21 | . 88 |
| . 70 | 14 | 15.50 | 15.66 | . 93 |
| . 70 | 28 | 18.47 | 19.80 | . 93 |
| . 65 | 7 | 16.19 | 18.79 | . 86 |
| . 65 | 14 | 18.07 | 20.32 | . 89 |
| . 65 | 28 | 20.41 | 24.15 | . 85 |
| . 65 | 91 | 22.10 | 24.38 | . 91 |
| . 55 | 7 | 16.58 | 19.86 | . 84 |
| . 55 | 14 | 20.61 | 28.15 | . 73 |
| . 55 | 28 | 24.87 | 30.39 | . 82 |
| . 55 | 91 | 27.31 | 33.15 | . 82 |
| . 45 | 7 | 22.43 | 28.28 | . 79 |
| . 45 | 14 | 26.02 | 31.17 | . 84 |
| . 45 | 28 | 27.7.0 | 35.11 | . 79 |
| . 45 | 91 | 29.06 | 35.75 | . 81 |

Table 5.2a: Experimental data for Abu-Hadriyah aggregate concrete for cement content $=300 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | AGE <br> (days) | COR (MPa) | EC (MPa) | COR/EC |
| :---: | :---: | :---: | :---: | :---: |
| . 65 | 7 | 19.09 | 19.80 | . 96 |
| . 65 | 14 | 23.92 | 24.02 | . 996 |
| . 65 | 28 | 22.85 | 25.94 | . 88 |
| . 65 | 91 | 25.68 | 26.41 | . 97 |
| . 55 | 7 | 20.48 | 24.25 | . 84 |
| . 55 | 14 | 22.11 | 28.47 | . 78 |
| . 55 | 28 | 23.44 | 28.83 | . 81 |
| . 55 | 91 | 25.89 | 29.33 | . 88 |
| . 45 | 7 | 23.53 | 28.70 | . 82 |
| . 45 | 14 | 26.88 | 31.87 | . 84 |
| . 45 | 28 | 30.43 | 35.43 | . 86 |
| . 45 | 91 | 32.15 | 35.50 | . 91 |

Table 5.2b: Experimental data for Abu-Hadriyah aggregate concrete for cement content $=400 \mathrm{~kg} / \mathrm{m}^{3}$.

| W/C | AGE <br> (days) | COR (MPa) | EC (MPa) | COR/FC |
| :---: | :---: | :---: | :---: | :---: |
| . 65 | 7 | 20.32 | 22.49 | . 90 |
| . 65 | 14 | 22.66 | 25.62 | . 88 |
| . 65 | 28 | 26.66 | 30.30 | . 88 |
| . 65 | 91 | 28.10 | 30.99 | . 91 |
| . 55 | 7 | 21.23 | 21.78 | . 97 |
| . 55 | 14 | 24.25 | 30.43 | . 80 |
| . 55 | 28 | 25.16 | 35.33 | . 71 |
| . 55 | 91 | 32.82 | 36.09 | . 91 |
| . 45 | 7 | 25.43 | 28.58 | . 89 |
| . 45 | 14 | 27.56 | 30.51 | . 90 |
| . 45 | 28 | 32.64 | 35.89 | . 91 |
| . 45 | 91 | 35.04 | 37.05 | . 95 |


| ъ/£ | $\varepsilon 9^{\circ} 0$ | $\varepsilon 9^{\circ} \mathrm{T}$ | 007 |  |
| :---: | :---: | :---: | :---: | :---: |
| $\square / \varepsilon$ | Gs.0 | $\varepsilon 9^{\circ} \tau$ | OST | EHa |
| も/ | ss. 0 | $\varepsilon 9^{\circ}$ T | OsE | ZHC |
| $\tau$ | ss.0 | $89^{\circ}$ [ | 008 | LHa |
| ( - |  |  | แ กั/5\% |  |
| 30 GZIS XVW | D/M | VE/YD | UNGLNOD LNGWGD | NOIUYNDISGa |



| $\begin{aligned} & 86.0 \\ & 86.0 \end{aligned}$ | $\begin{aligned} & 96^{\circ} 0 \\ & \varepsilon 6^{\circ} 0 \end{aligned}$ | $8 z^{\prime}$ I 59. $2=$ | $\begin{aligned} & L L \cdot \tau \varepsilon \\ & \text { sO.OZ } \end{aligned}$ | ع9•0 0 80.92 | $\begin{aligned} & 8 Z \\ & s z \end{aligned}$ | $\begin{aligned} & 8 \tau \\ & \nabla \tau \end{aligned}$ |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
|  | $\left.\begin{array}{\|rr\|} \hline s \cdot s & \cdot b s \\ & K q \\ 750 / 70 e & 0 \Omega \end{array} \right\rvert\,$ |  |  | (edW) จヨ ten7oe | $\begin{aligned} & \text { (NY) צот } \\ & \text { Tenłoe } \end{aligned}$ | sKep |

[^1]

| $S T \cdot \tau$ | $\tau \tau \cdot \tau$ | こ0＊ぁて | 89・もて | OL•LZ | $z z$ | 82 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $\varepsilon \chi^{\cdot \tau}$ | zて． | $6 \varepsilon^{\circ} \mathrm{OZ}$ | ［9．02 | 9I•sz | 65 | 鳬 |
| 9T「 | ST＇$\tau$ | $8 \tau \cdot 6 \tau$ | LE． $6 T$ | もと「ここ | 3T | 2 |
| I．s b $^{\text {g }}$ | $s \cdot s \cdot b \cdot \underline{d}$ | I＇s $\mathrm{b}_{\text {I }}$ |  |  |  |  |
| Kq | $\kappa \mathrm{q}$ | Kq 29 | Kq $\bigcirc$ ¢ | （EdW） 2 a | （NY）HOT |  |
| $750 / 700$ OG | $750 / 705$ | рәтещт75 | рә7еuт75s | Ten7oe | Tenzoe | sKep |

[^2]| $\begin{aligned} & 80^{\circ} \tau \\ & 86^{\circ} \cdot \\ & 0 \tau \cdot \tau \end{aligned}$ | $\begin{aligned} & \angle 0^{\circ} \tau \\ & 96^{\circ} O \\ & 60^{\circ} \tau \end{aligned}$ | $\begin{aligned} & 59^{\circ} L Z \\ & 59^{\circ} \angle Z \\ & 6 \varepsilon^{\circ} \cdot 0 Z \end{aligned}$ | $\begin{aligned} & 50 \cdot 8 z \\ & 50 \cdot 8 z \\ & 59 \cdot 0 z \end{aligned}$ | $\begin{aligned} & 06^{\circ} 6 z \\ & 00 \cdot L Z \\ & 6 \varepsilon^{\prime} z z \end{aligned}$ | $\begin{aligned} & s Z \\ & s Z \\ & 6 I \end{aligned}$ | $\begin{gathered} 8 Z \\ i \tau \\ \vdots \end{gathered}$ |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
|  |  |  |  | $\begin{aligned} & \text { (edW) ગ』 } \\ & \text { זen7oe } \end{aligned}$ | (NH) צৃ○T Ten7oe | sKep |




| $\begin{aligned} & 50^{\circ} \mathrm{I} \\ & \angle 0^{\circ} \mathrm{I} \\ & \angle 0^{\circ} \mathrm{I} \end{aligned}$ |  | $\begin{aligned} & \varepsilon 6^{\circ} \tau Z \\ & \angle 8^{\circ} 6 \tau \\ & 8 \tau^{\cdot} 9 \tau \end{aligned}$ | $\begin{aligned} & \text { 如 } \tau Z \\ & \angle \varepsilon \cdot \sigma \tau \\ & \text { s9's } \end{aligned}$ | $\begin{gathered} \tau \cdot \varepsilon Z \\ S L \cdot O Z \\ 8 Z \cdot \angle \tau \end{gathered}$ | $49^{\circ} 6 T$ $8 \text { I }$ <br> ST |  |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
|  | $\begin{array}{rr} S \cdot G & \cdot \sigma G \\ & K q \\ 75 \nabla / 70 E & \text { วG } \end{array}$ |  | $\begin{array}{r} S \cdot S \cdot B G \\ \text { Kq OG } \\ \text { peqeurţso } \end{array}$ | $\text { (eवW) } 0 .$ Ten7oe | (NH) HOT Ten7oe | SXEP |




| $\begin{aligned} & \varepsilon \tau \cdot \tau \\ & \nabla \tau \cdot \tau \end{aligned}$ | $\begin{aligned} & 9 \tau \cdot \tau \\ & 8 \tau \cdot \tau \end{aligned}$ | $\begin{aligned} & \tau \cdot 0 Z \\ & \tau \varepsilon \cdot 6 \tau \end{aligned}$ | $\begin{aligned} & \varepsilon 6 \cdot 6 \tau \\ & 8 L \cdot 8 \tau \end{aligned}$ | $\begin{array}{r} \tau \cdot \varepsilon Z \\ S \angle \cdot 0 Z \end{array}$ | $\begin{aligned} & 9 \tau \\ & \varsigma \tau \end{aligned}$ | $\begin{aligned} & \mathbf{8 z} \\ & \nabla \tau \end{aligned}$ |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
|  | $\begin{array}{r} 9 \cdot \mathrm{~s} \cdot \mathrm{bg} \\ \mathrm{Kq} \\ 750 / 70 \mathrm{e} \text { คG } \end{array}$ |  | $\begin{array}{r} 9 \cdot \mathrm{~s} \cdot \mathrm{bag} \\ \text { Kq } 0 马 \\ \text { pazeurfse } \end{array}$ | (edW) コฐ Ten7oe | (NY) deo Ten7oe | sKep |




| 76＊ | $90^{\circ} \mathrm{T}$ | $\tau 8^{*} \tau \varepsilon$ | So＇8Z | 78•6乙 | $\varepsilon \varepsilon \cdot 97$ | $00^{\circ} \mathrm{s}$ \％ | 82 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $\varepsilon 6^{*}$ | OT＇T | $\tau 乙 \cdot L Z$ | $60^{\circ}$ £ | โモ・乌て | £とてて | 00＊$\tau$ | も七 |
|  | $90^{\circ} \mathrm{T}$ |  | OZ ${ }^{\circ} \mathbf{O Z}$ | $S \varepsilon \cdot \tau 乙$ |  | $49^{\circ} 8 \mathrm{~L}$ | $L$ |
|  | L0＊ |  | \＃て＇SI | も¢・ら亡 |  | L9＇五 | $\varepsilon$ |
| $9^{\circ} \mathrm{g} \cdot \mathrm{b}^{\text {G }}$ | $S^{\cdot} \mathrm{S} \cdot \mathrm{b}^{\prime}$ | 9•S－ 5 島 | $S \cdot S \cdot S^{\prime} G$ |  |  |  |  |
| Kq | Kq | Ka DE | Kq จヨ | （EवW）Оज | （NY）oded | （NH）YOT |  |
| 7se引／70eg | 7seg／70eg | рә7eur！7sə | ре7еuт7sə | Ten7oe | renzoe | тeņコe | sKep |


toz

| 26 ${ }^{\text { }}$ | $\varepsilon 6^{*}$ | $\varsigma \varepsilon^{\bullet} \varepsilon \varepsilon$ | โ0＊$\varepsilon$ ¢ | モL•OE | L9 LZ | $00 \cdot 62$ | 82 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $68^{\circ}$ | $66^{\text { }}$ | 06＊ 62 | I8•9Z | ［9＊97 |  | $00^{\circ} \mathrm{z}$ | ®T |
|  | $90^{\circ}$ T |  | 20＊「Z | 8¢•乙て |  | $\varepsilon \varepsilon \cdot$［ | $L$ |
|  | $\angle 0^{\circ} \mathrm{T}$ |  | S9＊ST | $L L \cdot 9 T$ |  | $00^{\circ} \mathrm{S}$ T | $\varepsilon$ |
| $9^{\circ} \mathrm{G} \cdot \mathrm{B}$ | $S \cdot S \cdot \mathrm{~B}^{\prime}$ | $9^{\circ} \mathrm{S} \cdot \mathrm{b}^{\text {岛 }}$ | $S^{\prime} \mathrm{S} \cdot \mathrm{b}^{\text {G }}$ |  |  |  |  |
| ．$\langle$ q | $\Lambda \square$ | K¢ כ彐 | K¢ Оヨ | （EdW）Oヨ | （NY）odej | （NY）YOT |  |
| 7seg／70eg | 759］／70eg | рәтеயтт5ə | рәтеuт7sə | Ten7oe | Tenzoe | Ten7ae | sKep |



| ZT• | $90 \cdot \tau$ | 79＊9z | S0＊82 | 78． 52 | $00 \cdot \mathrm{sz}$ | 82 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| SI•I | OT＇T | oz＇zz | $60^{\circ} \varepsilon \tau$ | Lヵ・sz | 00＊Lz | \％ |
| 60\％$\tau$ | $90^{\circ} \tau$ | ［9＊6I | oz 0 oz | s¢• $\tau \tau$ | 4985 | 4 |
| T0＇I | ［0＇ 5 | $\angle \tau \cdot s \tau$ | もz－st |  | L9＊吾 | $\varepsilon$ |
| $L \cdot \mathrm{~S} \cdot \mathrm{~b}_{\text {G }}$ | $\mathrm{g} \cdot \mathrm{S} \cdot \mathrm{bg}$ | $L \cdot g \cdot b ;{ }_{\text {c }}$ | S ＇ $\mathrm{S} \cdot \mathrm{b}$ 可 |  |  |  |
| 7uI Kq |  | 7UI Kq Da | Kq 03 | （edW）จa | （NX）YOI |  |
| 7583／70eg | 752』／70eg | рә7ешт7sə | рә7еயт̣7sə | ［enzoe | тenzoe | sKep |



| 20\％ | £6＊ | 00＇0¢ | โ0＇$¢ \varepsilon$ | ¢ $2 \cdot 0 \varepsilon$ | $00 \cdot 62$ | 87 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| ¢0． 5 | $66^{\circ}$ | $\varepsilon \varsigma \cdot \varsigma \tau$ | โ8＊97 | โ9＊97 | 00・もて | \＃ᄃ |
| OT•T | $90^{\circ}$［ | SE． 0 \％ | 20．12 | 8¢＇zて | $\varepsilon \varepsilon \cdot 6 \tau$ | 4 |
| 80＊$\tau$ | $10^{\circ} \tau$ | 万¢＇st | ¢9＊¢T | LL＇9T | 00＊st | $\varepsilon$ |
| $L \cdot \mathrm{~S} \cdot \mathrm{bg}$ | $\mathrm{S} \cdot \mathrm{s} \cdot \mathrm{b}$ 可 |  |  |  |  |  |
| 7uI Kq | Kq | 7uI Ka OJ | ка จa | （EdW）D． | （NY）YOT |  |
| 7503／70eg | 7503／70eg | рәтещтүรя | рә7eur7s | ¢en7oe | тen7oe | sKep |



| $\angle 6^{\circ}$ | ®0＇ |  |  |  | әбехәле |  |  |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| SO＇ 5 | $60^{\circ}$ T | ZZ•8ع | $\varepsilon L^{\prime} 9 \varepsilon$ | 06＊$โ$ | $00 * 2 \varepsilon$ | 02•0ヵ | OT |
| $\varepsilon 0^{\circ} \tau$ | OT＇T | OT•8E | 98＊$\varsigma$ | 08＊$\tau$ | $0 \varepsilon \cdot \tau \varepsilon$ | OE•6E | 6 |
| $80^{\circ}$ T | L0＇ | L0＇LE | ZL＇LE | 06＊0¢ | $08^{\circ}$ 乙ย | $00^{\circ} 08$ | 8 |
| 66\％ | 96．0 | 00＊${ }^{\circ}$ | ぁて $\square^{\text {® }}$ | OT． 62 | 00＊0¢ | $00^{\circ} \varepsilon \varepsilon$ | $L$ |
| S6．0 | 86．0 | ¢ ${ }^{\cdot} 6 \varepsilon$ | L6＊$\angle E$ | $08^{\circ}$ z | $00^{\circ} \varepsilon \varepsilon$ | Oも．$\angle E$ | 9 |
| 26．0 | 97＇T |  | ع8｀⿱一𫝀口儿 | $08^{\circ} \mathrm{s}$ Z | $0 \nabla^{\prime}$＇z | $08 \cdot 87$ | S |
| $68^{\circ} 0$ | 66.0 | L8．$\angle 乙$ | $40^{\circ} \mathrm{sz}$ | 06＊zz | 09｀zて | 06＊ゅて | $\square$ |
| 06\％ | \＃0＇ | $9 \varepsilon^{\cdot 6}$ | oz＇sz |  | 0L｀てZ | $0 \varepsilon \cdot 9 Z$ | $\varepsilon$ |
| 56.0 | 80\％$\tau$ | โ6． s \％ | 80・も | 0こ＇โZ | 08＊ 27 | 0く・もて | $z$ |
| 86.0 | 00＊$\tau$ | $08^{\prime} \varsigma{ }^{\text {c }}$ | $0 \chi^{\prime} \mathrm{sz}$ | Ot＇tz | OL｀zz | $00^{\circ} \mathrm{s}$ 亿 | $\tau$ |
|  | $s \cdot s \cdot b g$ | 9．9－${ }^{\text {a }}$ | $S^{\prime} \mathrm{S} \cdot \mathrm{D} \mathrm{g}^{\prime}$ |  |  |  |  |
| Kq | Kq | Kの $2 \exists$ | Kq 0.9 | （Ny ）Odes | （NY）YOT | （edW） 29 |  |
| 752］／70e］ | 750．3／708． | pe7eurtasa | рә7eurtse | ［enzoe | cenzoe | Ten7oe | － ON |



## CHAPTER 6

## SUMMARY AND CONCLUSIONS

### 6.1 Summary:


#### Abstract

An elaborated test program was conducted in this study to develop strength prediction models, using the results of Lok-test and Capo-test in the Eastern region of Saudi Arabia. Based on the regression analysis of test data generated from concrete panels made with Jabel Dhahran and Abu-Hadriyah coarse aggregate, linear relationships relating compressive strength to Lok and Capo strength are produced. The proposed models have been verified for their reliability by comparing predicted strength by actual strength.


### 6.2 Conclusions:

1) It is clear that a linear relationship exists between compressive strength of cylinders and Lok and Capo loads with high coefficient of correlation almost above (0.90).
2) It can be concluded that age, W/C ratio, cement content and type of aggregate do not affect the relationship between cylinder compressive strength and Lok or Capo
strength.
3) The proposed models of Lok and Capo tests can be used to predict the strength of in-situ concrete made with Jabel Dhahran or Abu-Hadriyah aggregate in the Eastern Region of Saudi Arabia.
4) The next combined models of Jabel Dhahran and AbuHadriyah

Eor Lok strength $E_{C}=-2.95+1.24 P_{L}$
For Capo strength $E_{C}=1.53+1.15 P_{C}$
can predict the strength of in-situ concrete made by using different type of aggregate with an acceptable degree of accuracy.
5) The within-test variations of cylinder compressive strength, Lok and Capo strength are within the acceptable limits, where coefficients of variation are almost less than 10\%.

### 6.3 Recommendation :

Further research is needed in future to develop more accurate combined models by using different variables in the Kingdom such as:

1) More aggregate sources around the Kingdom.
2) Carbonation effect.
3) Maximum aggregate size.
4) High strength concrete.
5) Bleeding effect.
6) Position and orientation of pull-out test.
7) Effect of steel cover.

## REFERENCES

1) Bickley, J.A., "The varibility of pullout tests and in place concret strength", Concrete International: Design and Construction, V.4,No.4, April 1982, pp. 44-51.
2) Malhotra, V.m. and Carette, G., "Comparison of Pullout. strength of concrete with compressive strength of Cylinders and Cores, Pulse velocity, and Rebound Number", ACI Journal/ May-June 1980, pp. 161-170.
3) Chabowski, A.J. and Bryden-Smith, D., "A simple pullout: test to assess the in situ strength of concrete", Concrete International/ December 1979, pp. 35-40.
4) Khoo, L.M., "Pullout Technique-An additional Tool for in situ Concrete strength determination", ACI Special Publication SP82-8, American Concrete Institute. Detroit, MI, 1984, pp. 143-159.
5) Vogt, W.L., Beizai, V., and Dilly, R.L., "In-Situ Pullout Strength of Concrete with Inserts Embedded by Einger placing", ACI Special Publication SP82-9, American Concrete Institute. Detroit, MI, 1984, pp. 161-175.
6) Mailhot, G., Bisaillon, A., Carette, G.G:. and Malhotra, V.M., "In-place Concrete Strength: New Pullout Methods", ACI

Journal / December 1979, pp. 1267-1282.
7) "Proceedings - The Institution of Civil Engineers", Part 1, 1984, 76, May, pp.539-549.
8) Krenchel, H. and Petersen, C.G., "In-Situ Pullout Testing With Lok-Test, Ten years'experience", presented at the Research Session of the International Conference on In situ/ Non- Destructive Testing of Concrete, Ottawa, Ontario, October 2-5, 1984, sponsored by CANMET, ACI, THE CANADAIAN SOCIETY FOR CIVIL ENGINEERING and NATIONAL BUREAU OF STANDARDS.
9) Muzaffer Yener and Wai-Eah Chen, "On in-place strength of concrete and pullout tests". By ASTM., 1984 , pp. 90-99.
10) Ottosen, Niels Saabye, " Nonlinear Einite Element Anysis of Pullout Test," Proceeding, ASCE, V. 107, ST4, Apr. 1981, pp. 591-603.
11) Stone, W.C. and Carino, N.J., "Deformation and Failure in Large Scale Pullout Tests", ACI Journal, Technical paper, November-December 1983, pp. 501-513.
12) Bickley, J.A.,"Achieving Safety and Economy in High Rise Concrete Structure Through The Use of In-place Testing", presented at the Thrid International Confrence on Tall

Buildings, Chicago, Illinois, January, 1986.
13) Hans Chr. S.,"Lok-Testing A non Destructive Concrete Compressive Test", Seminar on Research S7., 10-4-1973, CEB 14) Krenchel, H., "Fracture Analysis of The Fullout Test", Materials and Structures, V. 18, No. 108.
15) Kierkegaard-Hansen, P., "Lok-Strength", Nordisk Betong, Journal of the Nordic Concrete Federation(Stockholm), No. 3 : 1975, pp. 19-28.
16) Petersen, C.G., "Capo-Test", Nordisk Betong, Journal of: the Nordic Concrete Federation (Stockolm), 5.6, 1980, pp. 11-14.
17) Carette, G.G. and Malhotra, V.M.,"In-Situ Tests: Variability and Strength Prediction of Concrete at Early Ages", ACI Special Publication SP82-7, American Concrete Institute, Detroit, MI, 1984, pp. 111-141.
18) Karim W. Nasser and Akthem A. Al-Manaseer, "Comparison of Nondestructive Testers of Hardened Concrete", ACI Material Journal / September-October 1987, pp. 375-380.
19) Johansen, R.,"Curing Conditions and In-Situ Strength Development of Cocrete Measured by Various Testing Methods",
20) Petersen, C.G. "In-Situ Strength Testing With Lok-Test. and Capo-Test The Danish Pullout Tests", presented at Caracas, Venezuela, November 17-21, 1980.
21) Krenchel, H. and Bickley, J.A.,"Pullout Testing of Con.. crete", Nordisk Betong, Journal of the Nordic Concrete Federation, No.6, 1987, pp. 155-169.
22) Sayed, M.H.,"Estimation of In-Situ Concrete Strength by Combined Nondestructive Method In Eastern Reqion of Saudi Arabia", M.S Thesis in KFUPM, Eebruary 1987.
23) Jansen, B.C. and Braestrup, M.W., "Lok-Test Determines the Compressive Strength of Concrete", Nordisk Betong, Journal of the Nordic Concrete Eederation(Stockholm), No. 2, 1976, pp.9-11.
24) Di Maio, A.A., Traversa, L.P, and Giovambattista, A., "Nondestructive Combined Methods Applied to Structural Concrete Members", American Society for Testing and Materials, 1985, pp. 89-94
25) Stone, W.C. and Reeve, c.P. "A new Statistical Method for Prediction of Concrete Strength from In-Place Tests", Cement, Concrete, and Aggregates. CCAGDP, V. 8, No. 1, Summer 1986, pp. 3-12.
26) Bickley, J.A., "Achieving Safety and Economy in High Rise Concrete Structures Through The use of In-Place Testing", paper presented at The Third International Conference on Tall Buildịngs, Chicago, Illinois, January, 1986.
27) Petersen, C.G. and Hansen, A.J.,"Timing of Loading Determined by Pullout and Maturity Tests", International Conference on Concrete of early ages, (Rilem, Faris), V. 1, April 1982, pp. 173-175.
28) Standard test method for pullout strength of hardened concrete. American Society for Testing and Materials, 1987, ASTM Standard C900-87.
29) Jaegermann, C., "A simple Pull-out Test for In-situ Determination of Early Strength of Concrete.", Magazine of Concrete Research, Vol. 41, No. 149, December 1989, pp. 235-242.
30) Krenchel, H., "Lok-Styrkeprovning og Capo-Styrkeprovning af Betons Trykstyrke", Serie I, No. 71, 1982, Departmnet of Civil Engineering, Technical University of Denmark, 2800-Lyngby, Denmark.
31) Petersen, C.G.,"In-situ Strength Testing with Lok-test. and Capo-test, the Danish Pullout Tests", Simposio Venezoland de productores de cementos, Caracas, 1980, American

## Concrete Institute.

32) Lekso, S. and Jensen, O.W.,"Testing of the Strength of Concrete Construction with Lok-test Equipment", Teknishke Meddelelser fra baneafdelingen, No. 7, The Danish State Railways, 1977.

[^0]:    In case of Capo-Test, Table 4.31 which show the relationship between compressive strength of cylinders and capo strength by using different $W / C$ ratios and cement

[^1]:    

[^2]:    
    Table 5．4c：Experimental data for Jabel Dhahran（DH2）aggregate

